#  

FOUNDED 1871

VICTORIA EMBANKMENT, LONDON W.C.

## THE CHAPACTERISTICS OF INSULATION RESISTANCE.

By S. EvERSHED, Member.

(Paper first received 2nd June, and in final form 10th September, 1913; read before The Institution 27 th November, before the Birmingham Local Section 26th November, before the Western Local Section 1st December, and before the Manchester Locad Section 2nd December, 1913.)

Reprint from the Journal of The Institution of Electrical Engineers, Vol. 52, No. 224.

The Institution is not, as a body, responsible for the opinions expressed by individual authors or speakers.

# THE CHARACTERISTICS OF INSULATION RESISTANCE. 

By S. Evershed, Member.

 Birminguam Local Sbetion zgilt Nojember, beforc the Western Locad. Sectlon mel December, aud before the Manchester Local Sectwn and December, tyi3.)


## I. Introductory.

During recent years a great deal of valuable research work has been done to increase our knowledge of the properties of insulating materials, yet notwithstanding the progress so made the natural laws governing insulation resistance are but little understood. So little, that if at the outset of this paper a plausible statement were made to the effect that the insulation resistance of an electrical system depended mainly upon the dielectric properties of the insulating materials, it might easily pass unchallenged. Possibly some objuctors might be found among those who have to maintain the insulation of electrical plant; for no one who has had much experience of the behavioux of insulation in practice, could fail to be struck by the disparity between insulating materials under test in the laboratory and the same materials under the ordinary conditions of use.

It is, of course, easy to guess that the disparity is generally due to the prosence of moisture, and in fact the only insulating materials whose behaviour in use corresponds with their predetermined dielectric properties are those which are non-ibsorbent. Of the remander, and they form the majority of the materials in common use, we can only predict that the instiation resistance of any electrical system in which they are tised will be governed atmost entirely by the moisture they absorb. Everyone knows that insumation resistance decreases on a damp day and recovers during dry weather. It is perhaps not so generally known that in most cases insulation resistance decreases, in a perfectly definite way and ahmost instan-
taneously, as the electric presstre upon it is increased, and slowly recovers if the pressure is restored to the initial value or cat off altogether;* The connection between these two facts is by no means obvious, yet they are so closely related that if we succeed in explaining one of them we shall certainly understand the other. It is often useful to attempt to explain familiat things; facts which, like the effect of a damp day on insulation, are so natural as to require no explanation-until we begin to think about them.
The effect of moisture, the effect of voltage, the effect of polarity, these and other phenomena commonly met with in insulation lave been forced apon the author's attention for many years pasi, and the pressing need to find answers to the questions that so frequently arise in connection with insulating materials induced him to undertake an experimental research with a view to the better understanding of their hehaviour in everyday use. This work has been in progress for three years, most of the time being spent in finding a firm basis for future work. But certain experiments have already thrown some light on matters which have hitherto been obscure, and the object of this paper is to render the knowledge so gained available for all those who are interested in the insulation of electrical plant. The specialist will find herein much with which he is well acquainted; but insulation largely concerns those who have no special knowledge about it, and on that account many things bave been introdaced into this paper in order to give a general view of the subject.

What is the margin between the worlking voltage and breakdown? That is the fundamental question at the root of every inquiry into the properties of insulation. If a definife answer is evor forthcoming, it will not have been found in "blind" tests of breakdown voltage. To conduct tests without any means for ascertaining what is going on in the insulator as the breakdown voltage is approached, without either observing the current or, better still, the resistance, is to shut our eyes and deliberately avoid looking for the cause of failire.t The author has therefore sought, by investigating the nature of leakage conduction, to establish some definite relation between applied potential difference and iusulation resistance. If the curve expressing this relation be traced from a few volts up to

* Since the first malf of this paper was ivaitten, Mr, D. R. Friedl:ender has drawn atlention to the relation between voltage and insulation resistance, and has given a typical example in the form of :t curve. (Communicated rematks in the discussion on Mre Rayner's paper on "High-voltage Tests and Energy Losses in Inssulating Materials," Jourval I.E.E., vol, 49, p. 79, 1912.)
$t$ The lash test is applied to some costly piece of electrical apparatas must have been intsired originally by something akin to the
heroism of the savage. heroism of the savage.
the hreakdown point, it will be found to consist in general of two parts of opposite corvature more or less like the voltage-resistance curve shown in Fig. 1. The two parts of the curve will be joined together by an approximately straight line, the length of which varies greatly according to the nature and condition of the insulation. This connecting link is sometimes so short that the two parts of the curve appear to meet at a point of inflexion and they then form a sort of ogee curve.

The research had not proceeded very far before it was fealized that the shape of the first part of this characteristic curve is determined by the extent to which leakage is due to moisture, and further that teakage through the substance


Fif, 1,-Conplete chameteristic curve for Cotion contanning a normal amount of moisture absorbed from the air.
of the insulator-dielectric leakage-was negligibly small compared with that caused by the merest trace of moisture. This leads to the point of view that for most practical purposes an insulator may be regarded as having no inlierent conductivity, the conducting power which it appears to possess being nastally eaused by leakage over damp surfaces. If the insulator is porous then the leakage surfaces are not only those outside the insulating body but those surfaces which bound the maze of capillary chanmels inside the porous material. If this idea be provisionally accepted at the outset the faets brought out by the experiments will be found to fall easily tato their places, and a fairly consistent view of leakage conduction will be obtained. The research divided itself quite naturally into two pats corresponding to the two significant parts of the chavacteristic curve. The invesfigation of the second or breakdown part
of the complete curve (sce Fig. I) is still in the prelimimary stage, and the present paper deals mainly with the first part up to the point or region of inflexion.

## 2. Mevhod of Invistigation.

To avoid encumbering the patper, methods of experiment will anly be described so far as they are essential. As a preliminary, a few words must be said here in order to remove any misapprehension as to what it is that goes by the name "insulation resi-lance," When a conductor resistance is measured care is taken to avoid the introduction of any extrancous electromotive forces due to polarization, induction, capacity, of thermorelectric junctions. By so doing, the resull of the test is a true measure of an inherent property of the conductor, namely the ohmic resistance apart from any other kind of resistance or opposition to the passage of an electric current. But with insulating materials similar precautions are not generally possible, and all that can be done is to measure the ratio of applied potential difference to the resulting current, V/I, and call that the insulation resistance. We may measure the two factors either separately by means of at voltmeter and a galvanometer, doing the division sum ourselves; or both may be measured at once by an ohmmeter which does the division sum for us. Either way the result is the ratio of pressure to current. It is customary to express this ratio in ohms or megohms, and there is no harm in doing so provided we realize that the "ohms" so obtained are not necessarily of the same nature as the ohms in a metallic conductor. Of course the true ohmic resistance of the insulator (if it has such a property) is included in the resuit of a resistance test, but it is so entangled with surface leakage, the effects of electrostatic capacity, and the penetration of electric charges into the substance of the insulator, that we are often obliged to be content to lump all these things together when we undertake the measurement of insulation resistance.

Resistances of very high value are often measured by charging the system under test and then observing the gradual fall of potential as the charge leaks away. But this method, being based on the assumption that the resistance of an insulator is independent of the potential difference, begs one of the principal questions the author set out to answer. Obviously it was essential to measure either the resistance or the leakage current.

In dealing with so unstable a quantity as insulation resistance there are obvions advantages in making direct measurements of resistance, and perhaps the greatest advantage of the olmmeter arethod is the detection of instability immediately it occurs. But it was desirable to have the means of measuring up to about one million megohms at 500 volts, and at peesent the galvanometer is the only instrument possessing the reguired sensibility, Tho use of olmmeters wats therefore confined to tests which came well within their range, and the greater part of the work was done by means of a Broca galvanometer made by the Cambridge Scientitic Instrument Compauy.

The galvanometer method gives no evidence of iustability until the ratios of pressure to current are worked out at the conclusion of a scries of tests, and the consequence of this lack of tincly waning wats that in many cases it proved to be impossible to plot a curve from the observations, just because the insulation had been in an unsteady condition
during the tests. For this reason alone much fruitless labour would have been avoided had il been possible to use an ohmmeter throughout the investigation.

The pressure was supplied by a battery of secondary cetls giving about 500 volts, and in a fow cases this was supplemented by a small testing generator giving t,000 volts. It should be mentioned that when leakage conduction is to be defected or measured, continuous curent is essential. Quite apart from the greatly inferior sensibility of alternate-current instruments, the allernating current due to electrostatic capacity is generally much larger than the leakage current, so that the latter is slifficult to disentangle and easily escapes detection alfogether. Methods have been suggested by which the two currents might be separated and what is now impracticable may one day come into use, but at present continuous current has no competitor in this field.

Guarded insulation-the method of Price's gatard wire extended to include every material insulating point in the fesling apparatus-is now miversal in insalation testing, This happy invention was of course used throughout the present investigation, and bence the current measured was in every case the current it was intended to observe and nothing else.

Belore quitting the subject of methods of experiment, a mino precaution may be referred to. Every insulator has some electrostatic capacity, however small. In most carses it was inappreciable and the clarging current could he ignored. But in every case in which a charging current


Fig. 2.-Insulation resistance of a Dynamo drmature, showing hysteresis effeet.
was observed, ample lime was allowed for it to die away to a negligible value before taking a reading of the leakiage current.

Electrical mersurement is capable of sueli precision that it was not easy to avoid aming too high in this respect. Upon the whole the precision of the apparatus was much
greater than the ature of the investigation required. The discrepancies that frequently occurred were almost entirely due to rapid and unavoidable changes in the insatator ander lest. Hence the accuracy of any set of tests wats


Fig. 3.-Insulation resistance of Field Coils : $A$, in dry weather ; B, on a damp day.
oflen a matter of luck, and it was only upon a general review of a large number of similar tests that any sound conclusions could be reached. These remarks are all the more necessary because it is no uncommon thing to sec insulation resistance expressed by a long row of figures, of which perhaps the first digit has something to do with the leakage current (and often much more to do with the charging current) and all the others have obviously been born of the slide rule,

## 3. Typical Examples of Insulation.

Although it is impossible to predict the insulation resistance of any piece of apparatus, yet if each of the insulating materials had a resistance as constant as that of a metal we might reasonably expect the insulation as a whole to follow Ohm's law. A few typical examples will show how little ground tiare is for any such expectation. In the choice of examples it does not matter what Icind of insulators are involved; so long as their resistance is within the range of measurement they will nearly all (ell the same tale of a gradual fall in the resistance as the testing voltage is increased. Characteristic voltage-resistance curves, obtained from things which lappened to be at hand, are given in Figs. 2 ito 7.

It will be seen that in every case the resistance falls th the potential difference rises, although the curves differ in slape a good deal and the decrease in the resistance is therefore much less marked in some eases than in others. It will be shown later on that these obvious variations in the curves indicate differences both in the kind of material used for insulation and the condition is regatds moisture, For example Fig. $z$ is a typical moisture curve, indicating that the insulation is entirely composed of absorbent


FIG. 4.-Insulation resistance of Lighting Circtits : A, in dry weather; $B$, in very wet weather.
materials. It is important to note that when the curve was retraced backwards a kind of hysteresis effect appeared. With absorbent insulators this effect is nearly always to be found if one chooses to look for it. The two curves in Fig. 4, one traced on a wet day and the other after a spell of dry weather, show that a large excess of moisture not only lowers the general level of the resistance but also brings about an entire change in the character of the curve. In the lower curve three things which are characteristic of conduction by moisture are struggling for the mastery. On a wet day every solid insulator is covered with a film of water which if it were in stable equilibrium would conduct according to Ohms law tind give a horizontal straight line.

But instability is a marked [eature of films when they are exposed to the air, and hence in practice the curve is never a simple shatight line. In addition there is some typical


Fig. 2.-Insulation resistance of a moving-coil Anmeter in which the ebonite insulation had become defective from an accumblation of dirt.
conduction through absorbent insulators, and the carve is the resultant of all three effects.

In Fig. 5 the resistance was in an unstable condition, several discrepancies being noticed in the course of the tests. This curve being retraced backwards from 500 volts also shows the hysteresis effect.

The curve in Fig. 6 is typical of insulation that is made up of an absorbent insulator in series with one which has a more nearly constant resistance, and when the nature of maisture conduction has been examined we shall see how the resistance of these two components may be separated and an approximate value assigned to each. In short, we shall arrive at the tentative beginnings of a rough diagnosis of insulation, Fig. 7 is remarkable because it shows that the resistance was affected by polarity. When the testing


Fig, 6.-Insulation resislance of a Supply Meter, a typical example of absorbent insulation in series with a nonabsorbent insulator,
generator was so connected that the circuit wires were positive and the earth negative, the resistance was $8 \cdot 7$ megolims; whereas when the polarity was reversed the
resistance foll to 57 megobms; both readings being those taken at 500 volts.

The polarity effect which bas just been noticed in connection with Fig. 7 is a strongly marked characteristic of eathenware insulators, and although it has nothing to rlo with the characteristic enrve some account of it seems to bo called for in a paper on instatation resistance. But the subject cannot be dismissed in a few lines and to avoid a long interruption in our nain argument the effect of polatily has been dealt with in an appendix under the heading "Insulation Valves." The matter is one which closely concerns everyone who bas occasion to test insulation in which earthenware of any kind is nsed as an insulator.

Before any gencral hypothesis can be framed to acoount for the characteristic behaviour of insulation in orclinary


Fig. 7.-Insulation resistance of Interior Wiring, showing polarity, or "valve," effect (Ohmmeter test).
A. with wires posilize, earth ncyalize,
B, with wires negralive, earth fosifive.
use, it is clearly necessary to know something about the individual behaviour of different insulating materials. For this purpose a brief outline will be given of the prolonged experiments that were made on a large number of materials which are in common use for insulating purposes. The materials inctuded rubber, gutta-percha, micanite, porcelain, cotton, paper, silk, oils, and varnishes. Not a tithe of the work done can be recorded here, but it will be sufficient to describe a few of the more important experiments made on insulators which are typical of their class.

## 4. Dielectrio Resistance,

Our object being to leatn something about conduction through moisture, any dielectric leakage there may be Wrough the substance of the insulators can only beigoored if we first show that dielectric resistance is enormous in comparison with the resistance of the leakage paths which are formed by traces of moisture,

Figures may be found in the text-books for the specific resisfance of various insulators. What may be ealled good insulators vary from about So milhon megohms for mica up to about 50,000 million megolms for vulcanized rubber-the centimetre cube being the datum, Such figures as these convey no more meaning to the mind than the distance of a star expressed in miles; we do not want figures so much as relative magnitudes. The consideration of an example of dielectric conduction will therefore be a useful preliminary because it will afford some insight into a subject which is but little understood outside the test room, and at fhe same time serve to create a proper sense of proportion.

The only non-absorbent insulators which were tested in the course of the work recorded here were gitla-percha and rubber. These are both non-absorbent in the sense that what little water they may be capable of absorbing is entirely unable to form leakage paths through the insulator. Submarine cables insulated with these materials have been lying on the bottom of the sea for half a century or more, and, so far ats the atthor is aware, no trace of conduction by absorbed water has ever been detected in a sound cable.

Rubber as an insulator for cables is so extensively used in every branch of electrical industry that it is naturatly the example chosen for illustration. The test sample was a rubber-covered flexible cable made up of $646-\mathrm{mil}$ wires, insulated in accordance with the standards of the Cable Makers' Association, and guaranteed to have an insulation resistance of not less than 600 megohms for one mile after one minute's electrification. The rubber is between 35 and 37 mils in thickness, and consists of one layer of pare Para and two layers of valcanized rubber. This flexible is used by the author's firm for the interior connections of naval gear and for that purpose it is supplied without any covering outsicle the rubber; it was therefore in suitable form for an under-water test. A length of this cable-equal to $\frac{1}{1 \pi}$ th of a mile-was put into a bucket of water, where it remained for 40 days. The tests which were made during that period consisted in charging the cable at about 500 volts and observing the total current flowing into it at intervals of time, so that a time-current curve might be drawn. Tests were also made by discharging the cable and observing that part of the discharge current which passed out through the galvanometcr. It should be noted that whereas during the charging of the cable the entire charging current traverses the galvanometer, no equivalent statement can be made about the discharge current. During discharge there are three parallel paths for the current: through the galvanometer, through surface leakage paths at the exposed ends of the cable (the guard wires being ineffective during discharge), and lastly the diolectric leakage paths through the rubber. Hence the discharge as recorded by the galvanometer does not agree exactly with the charge.*

Suppose the cable is charged through a resistance of $r$ megohms by a battery giving $V$ volts, the dielectric resistance being $R$ megolmis. Then the leakage current will be $V /(R+r)$ micro-amperes, and the initial value of

[^0]the charging current will be $\mathrm{V} / \mathrm{r}$ micro-amperes. The charging current dies away, rapidly at first then more and morc slowly. Uifimately, possibly aftor many hours, it will have fallen to a value which cannot be distinguished from zero, and the only appreciable carrent passing through the galvatiometer will be the true dielectric leakage, namely $V /(R+r)=I$. Since $R$ is always very large compared with $r$ the latter may be


F1G, 8,-Leakage current plus charging current flowing into a rubber cable, from oup to 7 minules.
neglected and V/I will correctly express the dielectric resistance at voltage $V$-provided the patience of the observer has not been exhausted before the final subsidence of the charging current to zero. The actual result of a test of this kind, made after the flexible had been in the water for 10 days, is shown in Figs. 8 and 9. In Fig. 8 the time-current curve is given from to seconds up to 7 minutes after the closing of the charging circuit; while Fig. 9 shows the same curve from 3 minutes up to 420 minutes (7 hours).
Incidentally these two diagrams afford a good iliustration of the misleading appearance of curves of this class. Judging from Fig. 8, one would infer that within 4 or 5 minutes the current was already nearly approaching its final steady value: "Well round the bend of the curve" is a phrase often used in this connection. But we have only to clinuge the time scale from minutes into hours, and magnify the current scale by a substantial amount, and the curve conveys a very different impression. Looking at Fig. 9, and again judging by eye, we now draw the inference that instead of a few minutes an hour or more must elapse before the current can be said to be "well round the bend of the curve."
The charge was continued for 27 hours without a break, and by that time the current fad fallen to oooong2 microamperes at 525 volts. This was assumed to be the true dielectric leakage current and its value is indicated on each of the diagrams by a horizontal line, in order that the relative magnitudes of charging current and leakage current may be seen at a glance.
It has been the custom ever since the early days of submarine telegraphy to observe the total current at the end of the first minute, and to call the ratio of the charging voltage to that current "the insulation resistance after one minute's electrification," a custom which is still achlered to by cable-makers. Inspection of the curve in Fig. 8 shows
that at one minute 86 per cent of the tofal current was charging current, only it per cent being true leakage current. Hence when a cable-maker specifies the resistance of cable sumilur to this as so many megohms, his statement only contains I4 per cent of the whole truth. Economy of truth, however, is on the side of honesty in this instance, and the buyer is doubtless aware of the customary method and sometimes understands what it implies.

In this paper we are more concerned with fact than custom. Fig. 8 shows that at one mimte the total current was 0.0051 micro-amperes at 525 volts, hence the value of what may be called the "customary resistance" was $525 / 0.0051=\mathrm{rO}_{3}, 000$ "megohms" for $\frac{1}{15}$ th of a mile of cable; and the customary resistance of one mile of similar cable would be $103,000 / 16$, or roughly 6,000 "megohms." The final value of the current being 0.00072 micro-amperes, the real dielectric resistance was $525 / 0 \cdot 00072=730,000$ megohms for $\frac{3}{1}$ th of a mile, equivalent to a dielectric resistance of 45,000 megohms for one mile of similar cable.

With these figures as a guide let us ascertain the relative importance of dielectric leakage and moisture leakage in some installation of inlerior wiring in which rubber instlated wires are used. The circuits which gave the characteristic curve shown in Fig. 7 afford a good example, being carried out with rubber-covered wire insulated to the same staidard as the flexible we have just examined. The conductors also are of the same cliameter in the two cases. The installation contains 380 yards of wire, conpled up in the usual way to a number of fittings in which porcelain is used exchusively as the insulator. Assuming the covering


Fig. ).-Leakage current plus charging current flowing into a rubber cable: continuation of the time-current carve in Fig. 8, up to 7 hours.
of the wires to be undamaged, the dielectric resistance of 380 yards of wire to earth will be about $45,000 \times \frac{1260}{3 \mathrm{Bo}}=$ 200,000 megolims, and the cnstomary resistance would be about $6,000 \times \frac{1500}{354}=28,000$ "megohms." We need not attempl to decide which of these valaes is to be taken, because it is only necessary lo look at Fig. 7 to find that the resistance of the installation as a whole was but a paltry 6 megohms, even when tested in dry weather. The relative importance is now obvious; leakage through the
dielectric rubber is nothing, leakage at the lithiggs is everything:*

What lats been demonstrated in the catse of rubber moust be equally true with regard to any insulator which has a resistance in any degree comparable with that of good rubber. The resistance of such materials as ebonite, sulphur, glass, mica, gutta-percha, shellac, dry paper, and dry cotton, is in every case enormons; like rubber theit specific resistance is measured by millions of megohms, and in most cases by thousands of millions. Hence dielectric leakage will be ignored in what follows. it a later section the eonduction through a porous insinator is compared with the quantity of absorbed water it contanned an experiment which incidentally gave another convineing proof of the relative insignificance of dielectric leakage.

## 5. Motsture Curves.

Collon--Although this material is so largely used as an insulator for wires the opportunity for ohserving its


Fig. 10.-Insulation resistance of Cotton which contained a normal quantity of moisture.
resistance seldom or never arises in practice. Several test-pieces were therefore made up for the purpose, cacli consisting of two cotton-covered wires wound side by sirle in a siugle layer on a well glazed porcelain bobbin so that leakage from one wire to the other could unly take place through the cotton coverings. One of these cotton testpieces when tested for insulation resistance from one wire to the other gave the curve shown in Fig. 10. After being dried in an oven at $150^{\circ} \mathrm{C}$. for a couple of hours, and then allowed to cool, this test-piece gave the curve shown in

* It may be remarked in passing that the average resistanee per fealage point is a useful criterion for the insulation of wiring. In the case of the resistance from wires to earth, the switches, fuse blacks, cuiling roses, lampholders (if they can leak to carth), and other places where the conductors are fastened to teaky insulators, constitute the feakage poinls. For resistance between the wires with the switelies clossed and the lamps removed, the lampholders alone are to he counted; and For resistance between the mires wills the lamps in place and the swilches open, the switehes are the only leakage points that coumt.
In the exmmpleconsidered in the text the resistmee to earth was abont 6 megolims, and there were 62 leakige points, bence the average resistance per leakage point was $6 \times 62=372$ mesolims. Remenbsering that one sivitech base of good guality migy have a reshetunce als fow at 100 megohms, it is evident that the installation is it whole wats in excellent condition as regards insulation.
Rules bused solely uron the number of kamps ate frepuently two remote from the facts to afford much guidance,

Figs. 11 and id. The resistance is now five or six times greater as the result of the partial evaporation of the moisture originally contained in the cotton, but the general character of the voltuge-resistance curve is unaltered. It will he noticed that at 500 volts the resislance has fallen to


Fiti. 11,-Inswhation resistance of Cotton ; the same test-piece as in Fig. 10, but partially dried by baking.
about one-third the value it had at 50 volts, on to put it shortly $\mathrm{R}_{50} / \mathrm{R}_{500}=3$. ${ }^{*}$ This is a rough-and-ready way of comparing curves which, although following similar laws, look very different to the eye simply because they are plotted to different scales. In the diagrams the value of the ratio $R_{v} / R_{10 \nu}$ is marked at the end of each characteristic curve so that different curves may be readily compared, and it will be found as we proceed that in the case of absorbent materials this ratio is more commonly nearer 2 that 3. After futher drying at $150^{\circ} \mathrm{C}$. for some hours, this


Fig. 12.-Insulation resislance of Cotton ; continuation of the curve in lig. 11 up to 500 volts.
same lest-piece gave the curve shown in Fig. 13. The effect of the drying process has been to increase the resistance to something like so times the initial value, but

* The exact value of the ratio is 2 : 8 in this example.
notwilhstanding the great diminution in the quatity of water in the colton, the curve retains the characteristic shape. The reason for this remarkable persistence in the law of moisture conduction under widely varying conditions will be found in a later section.

Paper.-Allhough cotton exhibits all the phenomena of conduction by moisture, it is not the most convenient material for experiment. Paper lends itseli very much


R1G. 13.-Insulation resistance of Collon; the same test-piece as in Figs. 10, 11, and 12 , after further baking.
better to exact conditions as regards the area and length of the insulator interposed between the two conductors. Various kinds of paper under a variety of conditions as regardis moisture, compression, length, and area, were


Fig. 14--Insulation resistance of Paper partially dried and tested at a compression of $2 \cdot 8 \mathrm{lb}$. per sq . inch.
exhaustively tested. The test-pieces were each composed of several sheets of paper cut to a suitable size and shape and laid in a pile on a flat copper plate which served is one electrode. A second copper plate on the top of the pile of paper acted as the other electrode, and by putting the complele lest-piece in a small serew press any compression could be obtained, from that due to the weight of the upper electrode to about too Ib . per square meh. As might
toe expected, paper behaves it much the same way as cotlon. The two cntves shown in Eigs. i4 and 15 were obtathed from drawing paper of good quality. In both cases the paper was in a normal state as regards moisture.


Fig. 55.-Insulation resistance of Paper; the same test-piece as in Fig. 14, but tested at 0.1 1b, per sq. inch.

The law of the characteristic curve is considerably affected by the degree of compression to which the absorbent material is subjected. The curve in Fig, I4 corresponds with a pressure of 28 lb . per square inch, whereas in the catse of Fig. 15 the pressure was only o' 1 lb . per square inch. The corresponding values of the ratio $\mathrm{R}_{50} / R_{5 \infty}$ were $24^{4}$ and 43. The latter figure is abnormally high and nothing approaching it has been observed in any tests of insulation under working conditions, probably because in practice absorbent insulators are always under a greater mechanical pressure. In Fig. i 6 the connection between compression and the ratio $\mathrm{R}_{v} / \mathrm{R}_{\mathrm{rg}}$ is traced from zero up to fo Ib . per square inch.

The degree of moistare in an absorbent material, like paper, may be varied within wide limits withont much


Fig, 16. -Influence of compression on the shape of the "moisture cutve " of Paper and similar insulating materials.
affecting the law of the moisture curve, althongli the corresponding variations in the resistance will be enormous. But when the material contans a considerable excess of moisture, so that it is sensibly damp, the law
begins to ehange; the ratio $\mathrm{R}_{v} / \mathrm{R}_{3 \text { nv }}$ gradually approaching unity as a limit and the curve subsiding into a horizontal straight line. In other words when an absorbent insulator


FIG. 17.-Moisture curves of damp Paperifshowing gradual change from moisture conduction to Ohm's law as the Paper becomes sodden with water.
is sodden with waler its resistance follows Ohm's law. This gradual change from a moisture curve is illostrated in Fig, ry, the curves being obtained from paper in which increasing quantities of water had been absorbed. Owing to the very low resistance of the wet paper, curve C could not be contimued beyond about i6o volts.

Micanite Cloth.-The test-pieces for examining this material were made up by wrapping a single thickness of the cloth round a piece of smooth iron pipe, and then winding a singie layer of cotton-covered wire tightly over it. The cloth was therefore tested under much the same


Fig. I8, -Insulation resistance of Micanite Cloth which contained moisture absorbed from the air.
conditions as are commonly met with in practice, micanite cloth being largely used as an insulator for windings. Of course in ordinary use there may be leakage over the
surface of the eloth in addition to that which takes place through the insulating material ; but as it was intended in these experiments to investigite condaction lurough the micanite apart from any other leakage, guad wiros were tightly twisted round the eloth which projected beyond the winding at each end of the test-piece.


FIG. I9.-The same fest-piece is in Fig, is tested 24 bours aften being dried in int oven. Notc: Onc hour after removal from the oven this test-piece had a resistance of $\mathrm{T}, 300,000$ megrohms at 500 volts.

One of these test-pieces, immediately after being wound and before being dried, gave the curve shown in Fig. 18. Notwithstanding the presence of the layer of mica the curve indicates conduction by moisture. The rather low


Kig. 20.-The same test-piece as in Figs. 18 and r9, tested nfter exposure to the air for (A) 5 days, and (B) 90 days.
resistance suggested that there was a good deal of water absorbed in the cloth, and the test-piece was therefore baked for about four hours at $550^{\circ} \mathrm{C}$. In one hour after removal from the oven the test-piece was cold and its resistance was then about $1,300,000$ megohms when tested at 500 volts. It was then left exposed to the air of the
experimental room in order to find ont to what extent micatnite cloth acted as an absorbent of atmospheric moisture. At the end of 24 hours' exposure the curve reproduced in Fig. if was obtained, showing that the resistance had fallen, although it was still barely within the range of easy measurement. The Lwo eurves given in lig. zo were obtained after exposure to the air for 5 days and 90 days respectively.

It is by no means surprising to find a laminated subslance like mica acling as an absorbent body, and in the form which it necessarily takes in micanite cloth there are inmomerable capillary spaces available for the formation of leakage paths. It should be noticed that in these curves the ratio $R_{50} / R_{g o \infty}$ is much less than 2; the average value deduced from seven curves obtained from micanite cloth test-pieces is 1.47 ,

Many other more or less absorhent insulators might be added, but the three examples which have just been examined are typical of the whole. The composition of the insulating substance seems to be of little importance. So long as the structure of the material is such as to provide capillary spaces to barbour moisture, leakage will lake place in the characteristic manner. Of course the difficulty of maintaining adequate resistance in absorbent insulators is futly realized, and they are seldom used withont an attempt being made to exclude moisture by means of some non-absorbent insulator applied as an oil or a vamish and intended to close all the capillary ehannels. In the following sections the effect of filling up the pores of absorbent materials is dealt with in connection with oiled paper and varnished windings.

## 6. Conduction through Oil.

Oils are good instalators in themselves, but they are capable of absurbing traces of water. An investigation was therefore made to ascertain whether water when absorbed in oil behaved in the same way as moisture in an absorbent solid. For the parpose of the test a glass beaker was fitted up with two flat copper discs, one above the other, to act as electrodes. The upper disc was adjustable up and down by a micrometer screw so that the electrodes could be set accurately to any required distance. Several different kinds of oils and varnishes (and also liquids which are used as solvents in varnishes) were tested in this apparatus and in every case Ohm's law was followed, the resistance proving to be a constant quantity not varying with the potential difference between the electrodes. It was necessary to know whether the same thing applied to oil in which water had been absorbed. The oil used for the test was a heavy hydrocarbon sold as a lubricant for gas engine cylinders. If had the disadvantage of it rather low resistatice-aboul 25 million megohms for a centimetre cube \%-but it was chosen becanse a large store of it was available, and hence uniform samples might be relied on. A trace of distilled water was dissolved + in the oil by putting a few drops into a bottle coutaining a pint of oil and stirring for many hours. The oil wats then left at rest for about 48 hours in order to allow the sus-

* The oil used for impregnating paper eables has a specitic resisisince of aboul 700 million megolimes, at $15^{\circ} \mathrm{C}$.
+ The water may not be in solution in at chemieal sense but it is permanently absorbert in the oil, whereas any water in suspension of permatenty absotiond in the onl, whereas any water io suspension of forming an emulion wit,
the bottom of the vessel,
pended wator to seltle down. The slightest trace of water in suspension is apt to catose instability in the resistance because all the suspended particles are slowly drawn in between the electrodes by the electrostatic force, and when there they tend to form conducting chains from one electrode to the other. The result of a test with oil containing absorbed water is shown in


Flti. 21.-Resistance of Cytinder Oil: A, when dry; B, containing a trice of absorbed water.

Fig, 2I, the upper curve being obtained from cylinder oil freshly drawn from the storage tank and the lower curve from the same oil after absorbing water. Notwithstanding some irregularity dne to water in suspension, the effect of the absorbed water is evident in the marked lowering of the resistance. But of any effect like that due to moisture in absorbent solids there is $n 0$ trace. In both curves the resistance is practically constant, Ohm's law being followed well enough.

## 7. Oil-impregaited Paper.

Paper containing moisture may be saturated with an insulating oil without producing any effect on the leakage paths formed by the water. The eurve shown in Fig. 22 was obtained from drawing paper which, while in a


Fig. 22.-Insulation resistance of Paper which had been soaked in dry Cylinder Uil for a week..
normal state ats regards moisture, was immersed in dry cylinder oil and left to soak for a week before being taken out and tested. The resulting curve does not differ in any way from an ordinary moisture curve, the ratio $\mathrm{R}_{50} / \mathrm{R}_{500}$
heing an for the ofled paper. It is evident that the oil does not displace the svater, or break up the conducting paths, or interfere in any material way with the chavacteristic condaction dae to the moistare which was present in the paper before the entrance of the oil.

The converse, however, does not hold gond. Watter will not only find its way into paper which bas been dried and soaked in oil, but will so far displace the oil as to form leakage paths. As is well known, paper impregnaled with oil easily absorbs water from the air. Henec the neecssity for the lead covering and soldered joints of an impregnatedpaper eable. To ascerlatio whether moisture absorbed by an impreguated paper cable was able to form leakage paths of the same kind as those in other absorbent solid materials, a short piece of lead-covered impregnated-paper cable was left with both ends open and exposed to the ait of the expermental room. The cutve shown in Fig. 23 was obtained when the cable had been open to the air


Fig. 23.-Insulation resistance of Oil-impregnaled Puper Cable with the ends open, after exposure to the aiv of the Experimental Room for 13 months.
for 13 months. There is nothing to distinguish it from the characteristic curves of more ordinary absorbent insulators. The ratio $\mathrm{R}_{50} / \mathrm{R}_{\text {spo }}$ is r '97, quite a normal value for a moisture curve when the absorbent material is under a moderate compression.

Although water ultimately finds its way into inypregnated paper, the process of absorption is extraordinarily slow. The piece of paper cable when first tested had a resistance of about one million megohms at 500 volts, and although this high value was not maintained for more than a month or so, it required nearly 0,000 hours' exposure to the air to reduce the resistance to 33,000 megolins. Had the cable been insulated with dry paper (not imspregnated) the resistance would have fallen to the same extent-in other words, the same quantity of water would have been absorbed-in fout or five hours at the most,

The experments on oiled paper lead irresistibly to the conclusion that the mode in which absorbed water forms conducting paths is substantially the same wheflee the insulator is saturated with oil or not. The water may be in the insulator before impreguation with oil or it may be
very slowly absorbed afterwards, but onee inside it will conduet electricity just as thongh the oil wats not there.

## 8. Varnished Windings.

Varnish is intended to prevent water from forming loakage paths. To do this it must either keep out water by closing all the pores at the external surface of the insulator, or it must interpose a solit and impervious layer of the body of the varnish between the conductors and the porous insulator. Applying varnish by a brush aims at the first allernative, vacuum methods aim at the second. It need hardly be pointed out that when a porons body is saturated with a liquid varnish, and the solvent is then dried out, the solid body of the varnost remaining in the insulator is necessarily insufficient in quantity to fill up the pores. They ean only be entirely filled up by soaking the insulator in oil, or in a melted wax or in some equivalent solid insulator whicle call be liquefied by heat. Hence a porous insulator, even when varnished, is likely to have many channcls available for the reception of water. Whether water can find its way into them depends on how far the varnish has been able to stop up the pores on the outside of the insulator.
Experiments on varnished windings occupied many months, and in several cases varnished test-pieces have been kept under observation for over two years. Their outcome can be summed up in a sentence, Varnish reduces the extent to which moisture is absorbed, but it seems powerless to stop absorption altogether if the windings are subjected to the temperature variations which occur iti ordinary use. This failure to exclude moisture was exhibited in every trial, both by test-pieces varnished by a vacuum method and by those which had received coats of varnish applied by a brush. A couple of tests will illustrate the whole series.

The vacuum method consisted in first baking the testpiece at $150^{\circ} \mathrm{C}$. for several hours ; then putting it into the vacuum chamber and exhausting down to a few mms. pressure; then running in the varnish until the test-piece was completely submerged, the vacuum pump being kept going and the varnish boiling for half an hour or so. Next, air was admitted to the vacuum chamber and the test-piece was left under atmospheric pressure for an hour or more in order to give ample time for the varnish to be forced into the insulation. After this the test-piece was baked for several days it a temperature not exceeding $150^{\circ} \mathrm{C}$, and aftor cooling, the resistance tests were begun. One of the testpieces, composed of two cotton-covered wires wound on a porcelain bobbin, had an initial resistance of 34,000 megohms after being varnished by this method with a black plastie varnish of good quality. The resistance folIowed Ohm's law, being constant at all pressures up to 500 volts, thus indicating conduction by the varnish and the absence of moisture conduction. Yet after exposure to the atr of the experimental room for 9 days this testpiece gave a perfectly normal moisture curve with a ratio $\mathrm{R}_{50} / \mathrm{R}_{5 \varphi \infty}$ equal to $2 \cdot \mathrm{I}_{\text {, }}$ and the resistance had already fallen to less than one-fourth of the initial value. This fall in resistance and change in the las of conduction are shown in the two curves in Fig. 24. The resistance continted falling for several months and ultimately settled down round abuct 2 or 3 megohms, rising and falling with the changes in the humdity of the air. A striking experi-
ment wats made on this test-piece by boiling some water in an open vessel in a room adjoining the experimental room. Upon openigg the communicating door so as to admit air laden with water vapour, the resistance of the test-piece immediately began falling and continued doing so for hall an hom. At the end of this interval the boiling


Fig. 24.-Insutation resistance of varnished Cotton: (A) 12 houss and (B) 9 days after baking. Showing the change from Ohm's law (when the lest-piece was dry) to moistare condtuction after a few days' exposure to the air.
water was removed and the windows of the experimental room were opened in order to restore the air to its original state. Within 3 minutes the fall ceased and the resistance began rising as steadily as it had fallen, until, in about 50 minutes from the time when the boiling water was removed, 'it had recovered its initial value. One could not have clearer evidence of the ease with which moisture is absorbed by a well-varnished winding.

The history of this test-piece affords a direct proof that the characteristic shape of the first part of the voltageresistance curve is the result of leakage through moistare. In its initial state, when ill moisture had been expelled by prolonged baking, we have a high resistance, and what little leakage there is follows Ohm's law becatuse the varnish itself conducts in that way. But a few days' exposure to the air is sufficiont to bring about a complete change in the mode of conduction, and in place of Ohm's law we have the characteristic curve which is common to all absorbent insulators. Finally, we see the resistance falling when the air is artificially charged with water vapour, and rising when the air is restored to its normal condition.

The other test to be described was made on one of the windings used for testing micanite cloth. Two coats of the plastic varnish were applied by a brush to the outside of the winding, and the test-piece swas then baked at $\$ 50^{\circ} \mathrm{C}$. for 32 hours, by which timg the varnish was quite dry. After allowing the test-piece to coot, the resistance from the winding through the micanite eloth to the tron core was about a million megohms. This high value was not maintamed for long. Within 20 days after removal from the oven a decrease was noticeable, and by the $74^{\text {th }}$ day the resistance had fallen to 33,000 megohms, The curve obtained on that day is given in Fig. 25. It should be compared with the carves given in Fig. 20 for a similar micanite cloth test-picce which had not been vamished. Both curves indicate leakage througli moisture,
but the varnish has in this case greatly reduced the amount of moistare which the insulation can ahsorb.
There can be little doubt that the failure to exclude moisture allogether is due to insufficient elasticity in the body of the varnish. Unless this is a highly elastic substance it is unable to follow the expansions and contractions of the svindings, and altimately the continnity of the coat of varnish is broken up, leaving numerous crevices by which moisture can onter.

## 9. Voluae of Water in the Leakage Channels.

The first stages in the investigation of any phenomena are necessarily qualitative, Arithmetical quantity only comes when an attempt is made to fit the phenomena into some kind of ordered sclieme. It is difficult to apply arithmetic to so elusive a quantity as the resistance of absorbed noisture, but at this point questions naturally arise as to the volume of water which is utilized in forming leakage paths, and what sort of relation that volume bears to the total volume of water in the absorbent insulator.

To find some answer to these questions experiments were made on the resistance of an absorbent insulator containing known quantities of water of a measured specific resistance. The insulator was composed of a rumber of circular dises of chemicatly pure filter paper, 125 cm . in diameter, piled up into a pad and moderately compressed between two flat metal electrodes. The pad of paper had an area of $122 \mathrm{sq} . \mathrm{cm}$., and its thickness (uncler the compression) was 0.53 cm ., so that the pad occupied a volume of 64.8 cubic centimetres. The specific resistance of the water used in this experiment was 2,500 ohms.
To begin with, a quantity of the water was put into the


FIG. 25.-Insulation resistance of varnished Micanite Clolh (compare with Fig. 20).
paper and left to distribute itself uniformly, The method of experiment was to measure the resistance of the pad and weigh it immediately afterwards. Next, to allow some of the water to evaporate and then to repeat the resistance test and the weighing. Proceeding slowly step by step, the water was Gually dried out and the net weight of the dry
paper ascertaned. In this way a number of corresponding values were obtained for weight of water in the paper and resistance of the pad. The ligures are given in Table I, the volume of water in cubic centinetres being taken as equal to the weight in grammes.

Table I.

|  | Volame of Water in the Pad of Paper <br> e.c. | Resistance of the Pad it suct volts (megolms) | Estimated Volame of Resisiance Wrater is. | Ratio of Resistanc: Wafer to Total Water, expressed in Parls per million | Percentage Volume of Water in (he Pad of Paper |
| :---: | :---: | :---: | :---: | :---: | :---: |
| A | I 68 | 93 | $188 \times 10^{-6}$ | 112 | 2.59 |
| B | 155 | 13 L | T34 | 87 | 239 |
| C | I. 48 | I79) | $98 \quad 0$ | 66 | 2.28 |
| D | 1.43 | 226 | $7{ }^{8}$ | 54 | $2+20$ |
| E | $1 \cdot 29$ | 369 | $4^{88} \quad$ | 37 | 1.99 |
| F | ${ }^{1} 44$ | 845 | 20 " | 18 | 175 |
| G | 1.08 | 1,280 | $\mathrm{I}_{4} \quad 3$ | 13 | $1 \cdot 66$ |
| H | I'00 | 1,870 |  | 94 | 1.54 |
| I | 059 | 23,600 | $0.74 \%$ | I3 | o'91 |
| I | A trace | $117 \times 10^{6}$ | - | - | 0 |

Remembering that the resistance of a centimetre-cube of the water was only 2,500 ohms, it is obvious by inspection of the figures in the second and third coltums that the resistance of the pad is out of all proportion to the volume of water it contains. Let us analyse one of the tests and see how the two things may be reconciled. Test $H$ is a convenient example, because there happened to be exactly I cubic centimetre of water in the paper. The problem is to utilize that volume in such a way as to give the water as a whole a resistance of 1,870 megohms. We must begin by using some of it to make a coudtucting path of the required resistance and of safficient length to go from one electrode to the other by a rather tortuous route; tortuous, because it must thread its way through a maze of capillary channels in the paper, Haviug formed the necessary resistance channels we may dispose of the rest of the cubic centimetre of water by storing it inside the paper as an entirely detached body or bodies, so that it can play no part as a conductor. By these arbitary proceedings the water will have been divided into two very unequal portions, which may be called resistance waler and tormant water.

Still dealing with Test H how much resistance water will be required to make up the observed value of 1,870 megohms? To answer this question some reasonable guess must he made at the length of the tortuons curnent path. Now the currenl will certainly bake the shortest available route, and there are such an cnormous number of intercommmicating chanels in the paper that the average length of all the available paths is unlikely to
be more than iwo or three times the distance between the electrodes. It wonld require a highly artificial arrangement of the libres in the paper to compel the carrent to travel anything like ton times the shortest distance, and in the following calculation it will be assumed that the average path is five times the distance between the ctectrodes. The efectrodes being separated by the thickness of the pad of paper-namely 0.53 cm --the assumed average length of current paths will be $2.65 \mathrm{~cm}, \ldots$

The volume of a conductor of given resistance length and specific resistance is $\beta l^{z} / \mathrm{R}$ so that at test-point $H$ we have-

$$
\text { Volume of resisfante ravater }=\frac{2500 \times 2.65^{2}}{1870 \times 10^{6}}=\frac{944}{10^{6}} \text { e.c. }
$$

Compare this volume witl the total quantity of water in the paper, aamely $I$ c.c., and we arrive at the figure given in the fifth column of the table:-Under the conditions at Test H the proporlion of resistance water to total wator was only 94 parts in a million.

The reader will distinguish between the observed quantities recorded in the table and the ligures which are the result of calculation based on certain assumptions, tacit and otherwise. Thus, the average length of the leakage paths has been assumed to be five times the distance between the electrodes; the dormant water has been assumed to occupy blind alleys entirely off the paths of the leakage current; and the conductivity of the water in the pad of paper has been assumed to remain coustant nolwithstanding evaporation. Let us see in what direction these assumptions affect the magnitude of the estimated volumes given in the table.

First as regards length. Since the volume of a conductor of given resistance is directly proportional to the square of its length, it is obvious that any underestimate in the length of the leakage path will result in an underestimated volume; and if we choose to double the assumed length, then the volume figures must be multiplied by 4

Nuw as to the disposal of the dormant water: In Test $\mathrm{H}_{3}$ the calculated volume of resistance water was $9^{4} 4 / 10^{6} \mathrm{c} . \mathrm{c}$, and the length of path 2.65 cm . Iranslated into more faniliar units the resistance water in the innumerable leakage channels was equivalent in the aggregate to a single thread of water rather over an inch in length, and a litile more than three-quarters of a mil in diameter.t Let us take some of the dormant water and distribute it along this thread in the form of detached drops, like dew on a spider's web. Ench drop, owing to its comparatively large volume, short-circuits the portion of thread to which it clings. To fix our ideas, we can suppose the drops occupy half the entire length of thread and therefore reduce the resistance to one-half. To bring up the resistauce to the observed value it will be necessary to reduce the sectional area of the remainder of the thread by onehalf, and that part of the leakage path which remains effective as resistance will now have a voltme equal to one-quarter of the value reckoned on the assumption that dormant water might be left ont of account. It is clear,

[^1]then, that this assumption leads to an overestimate of volume, and if the whole of the dormant water is shunted into sidings or blind alleys the volume of resistance water as calculated from the observed resistance is overestimated to the maximum extent.

The drops of dormant water which we have supposed to be distributed along the path of the leakage current might just as well be collected together to form one or more larger bodies of water. The primeiple is the same, and all we have to bear in mind is that the length of resistance thread which remains intact will be greater or smaller according to whether we choose to imagine the masses of water to be disposed along the current path or across it. To take an extreme case, if the whole of the dormant water which was present in Test H could be spread over the surface of one electrode it swould form a layer $1 / 122 \mathrm{~cm}$. in


FIG. 26.-Proportion of resistauce wetlor to the total quantity of water in a pad of paper (see Table 1).
thickness-about 3.2 mils. The resistance thread (which was about I in. long) would therefore be decreased in length by 3.2 mils, necessitating an equally insignificant decrease in its sectional area in order to maintain the observed resistance of 1,870 megolms. The dormant water would now be wholly in the eurrent path in the form of a very thin sheet, but as ils resistance would be much less than I ohm we may still regard all the water which is not in the resistance thread its dormant, in the sense that it does not form an appreciable part of the observed resistance.

Finally as regards evaporation: When water evaporates the electrolytic ions generally remain behind, and hence the number of ions in a tunit volame of the rematining water increases and the specific resistance falls. But the volume of a condactor of given resistance is directly proportional to the specific resistance, and hence by neglecting the effect of evaporation the volume of resistance water has been again over-estimated.

Taking all these matters into consideration, the figures given in Table I seem rather more likely to be overestimates of volume than underestimates. At all events they may be accepted as of the right order of magnitude, and the significance of the experiment stands out clearly in spite of some unavoidable guesswork: A vast proportion of the whole volume of water in an absorbent insulator is dormant in the sense just defined. The resistance of the leakage paths through the insulator is determined by an exceedingly small fraction of the absorbed water.

The relation between the volume of resistance water and the total volume is shown as a curve in Fig. 26. The total volume of absorbed water in the paper is here reckoned as a percentage of the volume occupied by the pad of paper.

## 10. Dielectric Conduction in Dry Paper.

Incidentally the weighing experiment affords another example of the relative importance of moisture conduction and dielectric conduction. Referring once more to Table I, we see that when the absorbed water was reduced to a mere unweighable trace, the resistance of the pad of filter paper rose to nearly i2 million megohms, corresponding to a specific resistance of about 2,700 million megolms (cm. cube). This is far below the specific resistance of more thoroughly dried paper, which is certainly not less than 26,000 million megolms. The author is indebted to Mr . Welbourn for this figure; it is a value obtained by the British Insulated and Helsby Cables Company in their test room with carefully dried paper, but even in this case it is doubtful if every trace of water had been removed.
Accepting 26,000 million megolims as at all events a lower limit, it is evident that in Test I moisture conduction was at least 5,000 times greater than dielectric conduction, and in Test A when the pad of paper was much nearer a normal state as regards the quantity of absorbed water, moisture conduction outweighed dielectric conduction more than a million times.

## it. The Laiv of the Moisture Curve.

The experiments on absorbent insulators suggest that underlying the phenomena there is some ascertainable law of conduction by moisture. The fact, which the wary reader will have perceived already, that it has been possible to compare one curve with another without laking potential gradient in the insulator into account, is sufficient proof that the curves have some simple property in common. And so they lave; for in every case in which moisture conduction alone controls the resistance curve, it is found that over a considerable length along the curve the ratio $\mathrm{R}_{v} / \mathrm{R}_{40 \sim}$ is fainly constant whatever may be the value of $v$ in volts. Hence although the insulators have varied widely in thicliness, the ratio $R_{50} / R_{500}$ has served quite well as a rough guide for comparing the different curves.

A good example of this property is afforded by the moisture curve for cotton given in Figs. 11 and 12, The fact that in this case a line drawn through the plotted observations forms a smooth curve over a very wide range of potential difference is of itself an indication that disturbances were absent, and hence we are justified in looking here, if anywhere, for a simple kaw. Table II gives

Lalf a dozen ratios of $\mathrm{R}_{2} / R_{\text {too }}$ read off from this curve, and considering the inevitable diserepancies due to instability the figtres are renarkably constant and point to a definite law.

Thble II.

| Voltage Points for which Rettion is rectroned | Katio Reikuri |
| :---: | :---: |
| 5 to 50 | $3 \cdot 0$ |
| 10, 10, 100 | 31 |
| 20 , 200 | $3 \times 1$ |
| $30=300$ | 29 |
| 40 , 400 | $2 \cdot 8$ |
| 50 ". 500 | $2 \cdot 8$ |
| Mean value of ratio |  |
| $\mathrm{R}_{\text {® }} \mathrm{R}_{\text {roter }} \cdots \cdots$ | 295 |

The law would be expressed empirically by the formulat-

$$
\mathrm{R}=k \sqrt[x]{\frac{1}{x}}
$$

and since in this particula curve the ratio $\mathrm{R}_{v /} / \mathrm{R}_{\text {or }}$ is only a little less than $\sqrt{10}$, the exponent it must be a number not much greater than 2 .

But Nature generally dectines the Procrustean bed of formula. Just as in the case of fluid friction she has persistently declined to limit herself either to the first power or to the second power of the velocity (the only alternatives offered to her by the mathematical descendants of Procrustes), so here she refuses to abide by any one exponent. But in each particular case a value may be chosen for $x$ which will express the law of the individual curve over a great part of its length, and hence when the ratio $\mathrm{R}_{v} / \mathrm{R}_{\mathrm{ton}}$ has been found by experment, the formula may be applied to ascertain any other ratio $R_{v} / R_{n z}$ for values of $n$ lying between I and 10 . Beyond this modest degree of practical utility the formula is only useful as an indication of the general character of the moisture curve, Further analysis of the characteristic curves may prove useful in suggesting causes for the wide variatiolis from the ideal curve, but in the present stage it is safer to be guided by average results.

## 12. Compound Insulation.

If the examples which have como under review in the foregoing pages are divided into two groups according to whether the insulator was composed of absorbent materials alone, of on the other hand buil up of some non-absorbent dielectric insulator in series with an absurbent instlator, then their characteristic curves will be found to exlibit a marked difference in eurvature, the decrease in resistance being much larger in the tirst group than in the second. Figs. 2, 22, and 23, are examples of wholly absorbent VOL. 52.
insulation, and Figs. $3,6,20$, and 25 , all telate to what may bo called compound insulation. In 47 curves obtained trom insulation, composed entirely of absorbent materials, such as cotton, paper, cardboard, fibre, and other things, both varnished and unvarnished and including oil-impregnated paper, the average value of the ratio $R_{50} / R_{500}$ was $2 \cdot 20$.
This figure is confirmed by the resulis of a mumber of insulation tests on absorbent materials carried out by Mr. E. 11. Rayner at the National Physical Laboratory.: The thaterials included presspahn, Manila paper, oiled paper, oiled boatd, ofled linen, Excelsior paper, Excelsior linen, and fibre, some of them being tested both in their ordinary condition and after varnishing. The insulators were tested tnder a compression of about 5.8 lb . per sq. in., and a reference to the compression-ratio curve in Fig. 16 shows Hate the tatio $\mathrm{R}_{v} / \mathrm{R}_{\mathrm{xoy}}$ might be expected to be about $2 \cdot 1$. Bot as the resistance of each insulator was tested first at 200 and then at 1,000 volts, the value of $\mathrm{R}_{v} / \mathrm{R}_{\text {rov }}$ may be more closely estimated from the observed value of $\mathrm{R}_{800} / \mathrm{R}_{\text {tocos }}$ by an application of the empirical formula. Mr. Rayner gives 17 tests within the range of measurement, and taking the whole of these the average ratio $R_{w /} / R_{5^{v}}$ is 1 " ${ }^{1}$. In arriving at this figure all the readings taken at 200 volis affer the application of $\mathrm{x}, 000$ volts have been exclucled, as in nearly every case they showed a marked bysteresis effect. Now the formula shows that $\log \left(\mathrm{R}_{\mathrm{p}} / \mathrm{R}_{\text {rov }}\right)$ will be equal to $\log \mathrm{I}^{\prime} 71 / \log 5$ and hence we find that in Mr. Rayner's 17 tests the average value of the ratio $R_{v} / R_{r o z}$ ivas $2 \cdot 15$, compared with the author's figure of 220 deduced from 47 curves. The figure $2 \%$ may therefore be regarded as a good average value for the ratio $R_{v} / \mathrm{R}_{\text {xov }}$ for insulation which is wholly composed of absorbent materials, used under a moderate degree of compression.

But in the case of 12 curves obtained from compound insulation, that is to say insulation in which dielectrics like mica or ebonite were used in series with an absorbent material, the same ratio had all average value of a little less than I'4. The difference is easily accounted for. The law of moisture conduction in any given absorbent material must be the same, whether there is a dielectric insulator in series with it or not, and assuming the dielectric has a constant resistance the absorbent insulator alone is responsible for the curvature of the resistance line. For an example turn to Fig. 6, which is the characteristic curvo obtained from a supply meter in which the absorbent insulation of the windings is in series with the ebonite that seryes to iusulate the working parts from the case of the imstrument. As it stands the ratio is only 1.35, but suppose we draw a new horizontal line at such a distance below the curve as will make the ratio $R_{50} / R_{\text {goo }}$ as deduced from measurements from this line to the carve, equal to the average for absorbent materials, namely $2 \cdot 2$. Then ordinates measured from the new datum up to the curve will represent the resistance of the absorbent insulation of the windings, and the distance from the new datum line down to the original base line will represent the resistance of the ebonite.t The lieight at which to

[^2]draw the new datum is easily found by trial and error, or it may be found at once from the following formula :-
Constant parl of resistance $=($ fotal resistance at 500 volts $) \frac{a-n}{11-1}$
where $n$ is the observed value of the ratio $R_{50} / R_{500}$ and $a$ is the value of this ratio for the absorbent insulator by itself. In the present example the observed resistance at 500 volts was 1,140 megohms, $n$ was $I 35$, and we may take for $a$ the average value $2 \% 0$. With these figures the resistance of the ebonite alone is found to be Sro megohms, and a datum line has been drawn in Fig. 6 to represent this value. The only uncertainty here lies in the value we choose for $a$, the ratio for the absorbent part of the insulation. Now although we have seen how mechanical pressure on the absorbent material may cause this ratio to vary from about I'7 up to as much as $4^{\prime} 3$, yet such wide variations have not been found to occur in practice, Probably absorbent materials are always used under compression, but however that may be, the ratio for absorbent insulators under the ordinary conditions of use does not seem to exceed $2 \cdot 6$, and it is frequently as low its $1 \cdot 8$. If these extreme figures are substituted for 2.2 in the above calculation the resulting values for the resistance of the ebonite will be soo and 640 megohms respectively instead of 8 ro megolms. Such variations as these do not in any way affect the utility of this method by which the two components of an insulation may be separately estimated. In general, if the curve of a compound insulation of the kind we are considering shows a ratio as high as 2 we may be sure that the resistance of the dielectric component has fallen to something approaching zero, either because it has broken down in itself, or because it has been shunted by some kind of absorbent dirt. An example of this happens to be available in Fig. 5. This curve was obtained from an ammeter having absorbeut insulation in series with ebonite, yet the tatio is nearly 2 and the resisfance is much below the nommal value for insulation of the kind.

Upon removing the cover of the instrument the ebonite was found smothered in it mass of tibrous clitt which in the course of a dozen years or so had found its way there through a small bole in the case. Upon removing this lighly absorbent shant and cleaning the ebonite the resistance tose to over one million megohms.

It must be remembered that a non-absorbent clielectric in series is not the only curuse of a low ratio value. We have already seen in Fig, 17 how the curve flattens out when thore is enough absorbed water to form paths of constant resistance in patallel with those svhich give a typieal moisture curve. But under such circumstances the resistance curve will be so very far below the average level which it occupies under more normal conditions that there is no likelihood of the low ratio that is associated with wet inswation being altributed to the presence of a non-absorbent dielectric in series with the absorbent materials.

The percentage degrec of absorption at which leakage paths of constant resistance begin to form inside a porous insinhtor must maturally vary widely in different cases, Judging from the shape of fle eurves obtaned from paper It would appear that so long as the absorbed water does not exceed the amount which is naturally absorbed from the air, feakage through paths of varable resistance is
paramount and the normal moisture curve will be obtained. How far paper is typical of absorbent insulators in general remains to be seen.
The experiment of weighing the water has already shown us how small a proportion of the absorbed water is actually utilized in forming the leakage paths which determine the resistance of an absorbent insulator, Referring once more to Table I, we see that under quite ordinary conditions the dormant water may easily ontweigh the resistance water by at least 10,000 to 1 . The exact proportion is of little importance, but when once the principle governing the disposition of absorbed water inside a porons insulator has been grasped, the confusing phenomena of leakage through moisture begin to arrange themselves in some sort of order.

## 13. Electric Endosmose in a Model Insulator.

So far the investigation had not suggested any rational explanation of the moisture curve ; possibly because the importance of the principle just referred to was not recognized until after the model insulator, which is now to be described, had given a visible demonstration of the cause of the gradual decrease in resistance with increasing potential difference. The explanation given in the following pages was ultimately arrived at, not as the result of previous experiment, but by first considering what was likely to happen when atmospheric moisture condensed inside a porous insulator, and then putting the notion to the lest of experiment.

When condensation takes place on the surface of a solid body it first makes its appearance to us in small detached drops clinging to every roughness, every scratch on the surface. If we suppose the solid body to be an insulator of inlinite (or at all events immeasurable) resistance, the presence of detached drops of water will not make any appreciable change in that resistance, and the same holds good for the maze of internal surfaces inside a porous insulator when moisture condenses there. But, as we have seen, the absorption of a mere trace of water brings about a vast decrease in resistance; reduces it from an immeasurable value to one easily within the range of our instruments. We cannot suppose the drops to coalesce in order to form it continuous leakage path, because in that case conduction would be simply that of an electrolyte and would follow Olm's law, leaving the moisture curve unexplained. We must therefore look for connecting links between the drops to establish a complete conducting chain. It would be natural to- suppose the links to be films of some kind condensed on the surfaces of the capillary passages in the insulator, and to account for the characteristic curve the films would have to be endowed with a property analogous to that of the electric arc ; with increasing electric pressure they must inctease their sectional area either by reason of the leakage current: they carry, or in consequence of some effect which, like endosmose, depends on the potential gadient. At the time this hypothesis was furst outlined it hardly appeared any more likely to contain the germ of truth than half a dozen athers that had suggested themselves in the course of research, only to break down on trial. Nevertbeless it was put to the lest of experiment, and has proved itself capable of accounting for the facts.

To experiment with a series of drops and connecting films deposited on any kind of exposed surface would have
led to almost certain faiture, owing to the dilliculty of protecting the filus against currents of air. This liability is almost non-existent inside a porous insulator, where any consideable ehange in the Fumidity of the air occupies a comparatively fong time, and the consequent changes in the films and their resistance are not too quick for experiment. To imitate this condition of moderate stability it was decided to constrthet a model insulator by drawing a secies of drops of water and bubbles of ait into a capitlaty glass tube, so that each bubble should constitute an enclosed region within which a him could form on the intermal surface of the tube and remain there entirely undisturbed by air curvents, Glass was not only an obvi-


EIG. 27.-Elementary Model of an absorbent insulator. The upper figure represents one of the air babbles as seen in the field of a microscope.
ously convenient insulating material for the purpose, but as it was intended to look for some visible effect of endosmose at transparent tube was essential.

The glass tube, which was about a couple of inches in length with a bore of 12 or 14 mils, had its ends bent downwards so as to dip into water contained in two small beakers. Before placing the tube in position it was completely filled with th suecession of drops of water separated by bubbles of air, the bubbles having an average length equal to four or five lines the bore of the tube. Two copper wires, one in each beaker, served as the clectrodes. The complete arrangement, as shown in Fig . 27, was fixed under a microscope in such a position that portions of two adjacent clrops, with the whole of the air bubble in between them, came within the held of view, as inclicated
in the upper part of the same figure. At A and B dark transverse lines, corresponding to "Newton's rings," were seen at the encl of each drop whore the water-air surface approaches the glass at a capillary angle. These Ines formed convenient gauges for estimating the inilial thickness of the film of water deposited on the glass, and it swas apparent that in the neighbonthood of the capillary edges of the drops the thiokness of the film did not exceed que-quather of the mean wave-tength of light.

To nnderstand the behmion of this buhe it is necessary to have the principle of electric endosmose clearly in mind, and as ilis effect is itmost inseparable from electricity and water a short accome of it may not be out of place in a paper which is so latgely concerncel wieh the passage of a leakage current through moisture.

To begin at the begming. When an ctectricallychatged body is placed in an electeic field it is attracted one way or the other according to whether the charge it holds is positive or negative, the atmaetive force being proportional to the potential gradient (volts per centimetre). It does not matter what the attracted body is made of ; water will do as well as anything else, and, given the proper conditions as regards voltage gradient and so on, it will move. For instance, wator which is lying on an insulator in an electric field will be urged towards the negative side of the field and will flow in that direction if it is free to do so. A little scrap of paper jumping up from the table towards an electrified stick of sealing-wax is a more familiar example of the same action. The electrification of the sealing-wax provides the potential gradient, and the scrap of paper moves up wards if the gradient is steep enough.: Both the scrap of paper and the water move for the same reason, and the only difference lies in the mode by which they receive the necessary charge of electricity. In the case of the scrap of paper the charge is induced by the sealing-wax; whereas the water becomes charged by conlact with the insulator, just as zinc becomes charged by contact with copper. But although no real difference in principle is involved the action goes by very different names in the two cases. When the serap of paper jumps we are content to say that it does so because it is attracted, whereas when the water moves because it is similarly attracted the action is called endosmose.

Any liquid would exhibit the phenomena of electric endosmase provided two essential conditions were fulfilled. These are that the liquid must be either electropositive or negative to the channel which contains it, otherwise there will be no charge and no force; and its specific resistance must be very high, otherwise it will be impossible to maintain a steep potential gradient inside the iiquid without overheating by excessive cutrent. Let an aftempt be made to propel mercury by endosmose, and a gradient of something like 50 volts per centimetre would be required to overcome friction. But by the time the gradient had reached 2 or 3 volts per centimetre the resulting cutrent flowing in the merctury would have raised it to boiling-point and the experiment could not go on.

Water, and especially pure distilled water (or condensed

- Thates ( 500 B.C.), to whom swe atre indebted for the sealing-was experiment, does not seem to have haid any particular stress on potentiat gradient as an essential fator:
water), bappens to possess both the essential properties in a remarkable degree. It is strongly electro-positive to all insulators (with the one doublful exception of hatir) ; and its resistance is from 20 million to 2,000 million times greater than that of mereury, so that it is possible to maintain a potential gradient of several hundred volts per centimetre without any overheating by electric current.

Endosmose may be made visible in a short glass kube connecting two water vessels. By contact with the glass the water in the tube acquires at positive charge which occupies a cylindrical layer of water mext the wall of the tube, being held there by the corresponding negative charge in the glass surface. When a potential difference of several hundred volls is maintained between the water vessels, the charged water in the fube is strongly attracted towards the negative vessel and moves in that direction down the potential gradient. This movement is confined to the charged layer and such water ans it can drag along with it, and when the bore does not much exceed half a millimetre the whole of the water will be set in motion and may be seen travelling slowly towatds the negative end of the tube.

Endosmose has been chielly studied as it appeats in glass tubes and in the capillary passages inside porous materials ; hence the nane, which may be clumsily translated "within-propulsion." But the name must not mislead us. It is not essential to have the water within anything; all that is necessary is that the water should be lying in contact with an insulator and forming a conducting path between two electrodes. Then, if the voltage gradient between the electrodes is steep enough, and the water is free to move, it will find its way fowards the negative electrode whether there is any definite channel for it to run in or not. But without some kind of trough or tube the water is apt to go byall sorts of devious ways towards its goal, and the confused motion becomes difficult to follow by eye.

To return to the experimental tube with its chain of drops and films. On applying an electromotive lorce to the electrodes in the two beakers the effect of electric propulsion or endosmose was at once apparent. On closing the circuit the surfaces of the two drops visible in the held of the mieroscope instantly changed their corvafure, the positive surface $\Lambda$ pushing its edge ont towards the negative side of the field of view, and the negative surface $B$ decreasing its comvative by withdeawing its edge inwards. The dotted lines in Fig, 27 indicate the general nature of this effect, but grossly exaggerate the extent of the change. If the film connecting the two drops happens to be visible* every part of it is seen to experionce a sudden force pusting il towards the regative side. The effect of the bydraulic pressure produced in the drops by the eloctric propulsion is seen at the same lime; a strean of water is forced ont from the edge of the positive drop and hows rapidly towards the negative drop, iacreasing the thiekness of the film as it goes along. The advancing wave front (If in Fig. 27) of the travelling water is clearly visible, and if the polential difference is agradoally increased, the growing thickness of the now moving film is made apparent by its

* The firm is only visibie when parts of it are thick enongh to give shme of the colours of Nempton's rings. If its thickness is much less than a quater of a wave-dength the film exmot be seen
assuming, one after another, the colours characteristic of thin films.

The sectional area of the films is of course exceedingly small conpared with that of the drops and lience the resislance of a completu tuhe of given diameter is determined almost entirely by the aggregate length and mean thickness of the films, the resistance of the drops being negligible by comparison. The visible increase in the thickness of the film will therefore be made evident also by a concurrent fall in the resistance of the tube, and if a series of tests be made at gradually increasing polential differences the characteristic curve of the tube as an absorbent insulator may be drawn. In Fig, 28 a curve of this kind has been plotted from tests made on a glass tube about 15 in . long and 13.5 mils bore, containing water separated by 12 bubbles of air, each of which provided a film length of about 70 mils. The early part of the curve is smooth enough, bul the current became increasingly unsteady as the voltage was inereased and accurate observation was impossible at the higher readings.


Fig. 28-Characteristic curve obtamed from a capillary glass tube filled will drops of water and bubbles of air, and arranged as shown in Fig. 27.

When the electromotive force is cut off, the surfaces of the drops are instantaneonsly restored to their normal shape. The sumplus water in the films then withetraws very slowly into the adjacent clrops, until, after a period which may be hours sather than minules, the films are redueed to their initial thickness and the resistance of the tube recovers its initial value. The extreme slowness both of the intial formation of the films and their recovery after the application of amy considerable potential difference, was not fully readized unfil the results of all the tesis made on bubes were collated some time affer the conclusion of the experiments. It then became apparent that the majority of the tests made with single tubes had been curried ont heforethe lilms had settled down into a nommal condition, and their instability naturally led to large discrepancies, particnarly at the higher voltages.

But a single tabe, one capilary chanmel, conld hardily be expected to give a fathful imutation of a real insulator. Much better results have been obtained from models composed of a number of similar tubes connected in parallel, particnarly when they have been given ample time to settle down into a normal condition. The three curves in Fig. a9 were obtained from a model made up of 13 tubes in parallel, curve $\Lambda$ being taken 20 hours after filling the tubes, and curves $B$ and C at 44 and 98 hours respectively. In these tests leakage along the external surfaces of the

Lubes vas eliminated by gizarding each tube, and in order to ascertain whether the guard wires upset the uniformity of the potenlial gradient, a forth curve D was faken at II3 hours with the guard wires removed. This curve so closely follows curve C that to avoid confusion the moan values of the ohservations in the two tests have boen plotted in Fig. 29 as a single curve represenling both $C$ and D.

Reckoning from the average of these four corves the matio $\mathrm{R}_{50} / \mathrm{R}_{500}$ is 2.I, a figure which agrees surprisingly weil with the average ratio $2 \% 2$ obtained from absorbent insulators.

Hysteresis, which is stuch a marked feature of the moisture curves of real insulators, is equally characteristic of the model. In each series of tests upon the model the return curve obtained by retaicing the vollage stops from


Fig. 39.-Characteristic curves obtained from a Model Insulatoe composed of 13 crpillary glass tubes arranged in parallel.

500 back to 25 volts has indicated a pronounced hysteresis effect. The return curves obtained immediately after curves B, C, and D, have been included in Fig. 29, and should be compared with the examples of hysteresis in real insulators which have been given in Figs. 2 and 5 .

The general resemblance of the curves given by glass models to those which are characleristic of absorbent insulators is evident. In the decreasing resistance with increasing voltage, in the extent of the decrease, in the slow recovery or hysteresis, even in instability, the films and drops possess properties which are common to every absorbent instlator. The dormant water which we founcl in the pad of paper is here in the drops, and the resistance water is visible in the lilims which link the chops together into a conducting chain, and provide the light resistance.

But in one matter a simple model composed entirely of open tubes differs fundamentally from a porous insulator. The tirst effect of heating an absorbent instator is to bring about a very large decrease in resistance. Heat

Lhis too simple model, and the expanding atir bubbles lengthen the lifms and increase the resistance.

But, after all, the structure of the model is not much like the real thing. For the fangled maze of interçonnected ctrancls in a porous insulator the model substitutes a number of parallel channels, each going withont a break fom one electrode to the other ; it contains uo blind alleys and no cross-counections. Hence in the model the proportion of dormant water falls fur below the proportion which we have found by weighing the water in the real insulator. How far bedow cat only he estimated when the thickness of the filnss is known.

## If. 'titekness of the Fums.

The net resistance of a measured length of film in a glass tube contaning drops of water of known conductivity enables the thickness of film to be estimated, on the assumption that it is uniform. Reckoned in this way the films in the tube which gave the curve shown in Fig. 28 had a thickness not exceeding 10 millionths of an inch. The films are of course very far from being uniform in thickness and hence this figare is only a rough estimate.

One of the films in the same lube was measured by the method of Newton's rings, which gave the value 5.5 millionths of an inch.

The two measurements were made at the same time, the films having the maxinum thickness corresponding to a potential difference of 500 volts. The two values do not differ more than one would expect, and as the second method is the more aceurate we may say that in this tube the thickness of the films was about 6 millionths of an inch when swollen by the action of endosmose. Hence judging by the concurtent decrease of resistance, their initial thickness must have been about 2 millonths of an inch. This is so much less than one-quarter of a wave-length of light that in the initial state the film had no perceptible colom: by which to estimate thickness.*

## 15. Dornant Water in The Model.

We can now estinate the proportion of clormant water to film water in the model. Most of the tubes have been about 2 in. in length, and about half the length has been occupicd by films and the other hall by water. The bore of the tube being about $x 4$ mils, its perimeter is 44 mils, The initial thickness of the film was $2 / \mathrm{IO}^{6} \mathrm{in}=2 / 5,000$ of a mil, and the aggregate length of film was about 1,000 mils. Hence the volume of water in the films was about 88 cubic mils.

The sectional area of the clrops is $I 54$ sq. mils, and since they occupied about half the length of the tube their aggregate volume was thbout $\$ 54,000$ cubic mils. Hence the ratio of dormant water to film water was $154,000 / 88$ $=1,750$. That is to say for one part of water in the films there are something less than 2,000 parts of dormant water.
Now in a real insulator the corresponding proportion is, as we have seen, much more like 10,000 or even roo,000 to I from 5 to 50 times as much. To represent reality in this respect it would be neecssary to build up a model with

[^3] for about ryo molecules.
a very large number of closed tubes in addition to the open or conducting tubes, and to interconnect the two sets, by numbers of cross tubes. When the whole assemblage was filled with water and air it wond form one hydranlic system, although electric conduction would still be confined to the open tubes. The whole of the water, both in the open and in the closed tubes, would be attracted towards the negative electrodes, and at every place where there happened to be a convenient junction between a closed tube and an open one, dommant water might be driven out into the latter and assist in swelling the films in the conducting channels.

## i6. The Properties of a Modet. Insulator.

Heat this complex model and the expansion of the trapped airts in the closed tubes will drive a large volume of dormant water into the conducting channels. At the same time the expansion of the air in the open tubes may have lengthened or even broken up some of the films, but remembering that the closed tubes maty confain perhaps fifty times the volume of air and waters it is evident that the quantity of dormant water forced out from the blind alleys will be enough to flood the conducting ctrannels, quite apart from shat may happen to individual films. The flooding of the conducling paths naturally brings about an enormous fall in resistance. Lower the temperature and the air bubbles throughout the systen will contract and the flood water will retire into the blind alleys The films then slowly recover their initial thickness as the surplus water is forced out of them by the tension of the water-air surface, and the resistance rises to its former value. $\dagger$

Another remarkable property of absorbent insulation finds a ready explanation in the model with its inbes full of drops and fims. Over and over again in the course of the investigation a number of moisture curves have been obtained under widely different conditions as regards the quantity of absorbed water. Yet the curvature of the chatacteristic has remained prichically mochanged throughout the whole series of tesis notwithatinding the enormous changes in the genoral level of resistance whichatecompany changes in the amount of absorbed moistare. This permanence in the shape of the cucve las already been referred to, and in view of what has been demonstrated by means of a bundle of eapillary glass tubes the explamation is clear. Place a damp insulator in a dry atmosphere so that evaporation takes place, Evidently the more accossible films will evaporate first, followed by film after film, and the least accessible and thickest fims will be the last to go. But as each film gives more or less the same sort of curve, the curve from a rew dozen ifm channels in parallel would be indistinguishable in slape from the curve obtained when there were bundreds or thousands of films acting as parallel leakage paths. Hence so long as a few film channels are left intact-just enough to carry a measurable leakage current-the resistance-voltage curve will

[^4]retain its characteristic shape. We now realize why it was that a piece of impregnated paper cable which bad absorbed a trace of water, giving a resistance of several bundred thousand megolms, had a characteristic curve of the same shape as that obtained from a dymano armature the resistance of which was less than a dozen merohms. The curve is chatracteristic of the film with its adjacent reservoirs of dormant svater ; the magnitude of the conductance is simply a question of the number of film paths acting in parallel.

The marvellous rapidity with which the resistance alters when a change occurs in the humidity of the air is of course attributable to the extreme tenuity of the films.

All these phenomena should become visible in a complex glass model if only we had skill to make if. But, after all, the necessary complexity is available in every porous insulator, for there we have a tangled system of innumerable conducting channels, cross connections, and blind alleys, ready made; an claborate natural system which could not be imitated by any artificial arrangement of a few glass fubes. If we direct our mental vision to the inside of a real absorthent insulator we shall see a bewildering number of channels occupied by films and drops in which the same kind of actions are going on as those which are visible in the glass tube; and mingled with the elabotate hydraulic system there will be a quantity of air, some of it-perhaps a large proportion of it-trapped in blind alleys by pligs of dormant water, and always ready to expand when heated and drive the water out into the conducting channels.

## 17. Sumary and Conclusion.

This vision of what goes on inside an absorbent insulator, misty and imperfoct as it is, provides an explanation in general agreement with the facts, In putting it forward the atuthor is conscious of difficulties and obscarities which leave the mind doubtfal, but the doubts are just those which come from ignorance of the precise structure of absotbent bodies and the mode in which they harbour moisture, In all probability the microseope would dispel a good deal of this cloud of igmorance if it were applied to some typical material like a thread of cotton,

But the facts which have emerged from the investigation lenve no room for doubt as regards the main characteristics of insulation resistance uncler working conditions.

The true dielectric resistance of insulation is enormous compared with the actual insulation resistance obtained in practice, and in all ordinary cases we need only consider the loakage which takes place through films of moisture condensed on the external and infernal surfaces of the insilating material. Dielectric leakage is insignificant and may be left out of account.
The quantity of water in the conducting films of moisture is not only very small, but it forms an exceedingly small proportion of the whole volume of absorbed water.

Impregnating an absotbent instilator with oil or varnish delays the absorption of water and 10 doubt limits the amount absorbed, but it does not prevent the ultimate formation of the moisture films which constitute lealage paths.

Conduction through absorbent insuktion does not follow Ohm's law. The relation between the rosistance of an absorbent insulator and the potential difference which is
applied to it is expressed by a cuve which is chatacteristic of condaction by films and drops.
When the absorbed water exceeds the amound which the material can hold iu the form of dormant water and leakage films it begins to form conducting paths of constant resistance. Hence the moisture curve gradually decrenses in curvature as absorption goes on, and ultimately when the resistance has fallen to a very low value the curve is reduced to a horizontal straight line, indicating conduction by Ohm's law,

In compound insulation cousisting of an insulator in which conduction follows Ohm's law, in series with an absorbent material which follows the law of moisture conduction, the resultant curve has less than the normal curvature.

The degree of curvature in the characteristic eurve of compoind insulation enables the resistances of the two components to be separately estimated.
In compound insulation a curve of normal curvature indicates failure of the dielectric component. A straight horizontal "curve" (Ohu's law) indicates failure of the absorbent component.

Finally, the broad principle of film conduction in an tabsorbent insulator is clear ; the moisture curve-the first part of the complete characteristic eurvo-is the direct result of electric endosmose. The electrically produced hydraulic pressure drives dormant water into the films, and their increasing thickness is made evident by the gradual fall in resistance as the potential difference is increased.

At what point leakage through moisture becomes clangerous; whethor the ultimate effect of prolonged endosmosis is to safeguard the insulation by clriving all the water away from the positive conductor in a continuous-current system, and from both conductors if the supply is by alternating current; whether it is possible to predict the breakdown voltage-these and other questions can only be answered, by an investigation of the second part of the characteristic curve. Preparations for this are not yet complete, and so far it has only been possible to extend the curve to the breakdown point in one or two simple cases for which the voltage already available proved sufficient. In these examples the curve began to hend downwards at pressures well below the brealkdown value, thus indicating the impending failure without exposing the insulation to the risk of permanent injury. It remains to be seen whether this useful effect is general, or whether, as seems more probable, it is confined to insulating materials in which failure begins along already existing leakage channels. It is a significant fact that in the model insulator breakdown begins in the form of sparking along the films from one drop to another. Questions of this kind go to the very root of the matter. It is customary to account for breakdown by dielectric stress; a blackened hole appears in the insulation and the inference is too hastily drawn that the puncture process was instantaneous and could not have been foreseen by any kind of test. But nothing in Nature, not even an explosion, takes place instantaneously, and the breakdown of an iusulator is only sudden to the mind that does not apprehend it.

The time may never come when it is possible, by systematic insulation testing, to forestall breakdown by diagnosis of the disease and removal of the cause. Today the problem as a whole looks wellnigh insolable, and
with no visible goal ahead of us we must be coutent to gain a clearer insight as we go along in more or less the right direction. That road is always open to us and the author hopes tlat facts recorded in this paper may serve as stepping-stones on the way.

Nowt, - The whole of the experimental work has been carried out at Acton-lane works by Mr. S. F. W. Finnis, to whom the author is greatly indebted for the skill and palience with which the laborious and in many casos difficull experiments were conducted, Not the least among mathy difficulties was the necessity for carrying on the investigation without interrupting the ordinary work of the Experimental Department of which Mr. Fimmis has charge. The authot also wishes to thank Mr, B. Welbourn of the British Insulated and Helshy Cables Company for his kindness in providing samples of paper cables and the oll and paper used in their manufacture, together with data relaling to the specific resistance of these matorials. It is always a pleasant task to make acknowledginent of the help which is so freely given by ane member of the Institution to another.

## APPENDIX.

## Insulation Valves.

The effect which polarity has on the resistance of some kinds of insulation las been known from the early days of telegraphy in connection with overhead wires run on earthenware insulators. The same effect is frequently met with in testing the insulation resistance of clectriclight wiring. So far as the author is aware it was first traced to porcelain insulators by Mr . Bernard Holt. Writing from Perth, West Australia, to the author's firm, Mr . Holt has described some remarkable instances of valve action which he has come across. A new installation of interior wiring, when tested from one wire to the other with the switches open, gave 1.5 megohms with the testing voltage in one direction and 9 megohms when the polarity was reversed. Another installation gave a similar result and, by elimination, Mr. Holt traced the effect to the switches. One of these when removed from this installation and tested for insulation resistance from one terminal to the other, differed in resistance by-several hundreds per cent according to the polarity of the terminals. The switch was of the ordinary tumbler pattern mounted on a china base.
The author has had no difficulty in verifying Mr. Holt's tests in every particular. House wiring, whether tested from wire to wire with the switches open, or from the wires to earth, often shows a valve effect. Porcelain base switches of inferior quality have invariably acted like valves. On the other hand, switches of the best quality in which well glazed china is used gave resistances from about too megohms up to several thousand megohms, and it was only when the resistance was well within the range of the ohmmeter used for these tests that a valve action conld be detected. It is probably inherent in every earthenware insulator. $\Lambda$ number of switches of good quality were found to give Io megolms or so with the voltage applied in one direction, and over too megohms.
when the tosting leads were reversed, the fise in rosistance being practically instantancous. Apart from the highly insulating glaze, earthenware is something between a rather good conductor and a very poor insulator, but it need hardly be pointed out that if a switch base were covered in every part, including all screw hotes, with a good glaze which was enlirely free from cracks, the resistance between terminals or from terminals to earth would amount to several thousands or even millions of megohms. Such high values would indicate a needless perfection and are no doubt unattamable in practice, but when we fund many china bases of poor quality giving not more than one or two megohms each, even in dry weather, we naturally begin to inquire why some limit should not be set to the discontimuity of the glaze. A resistance of two or three handred megohms yrould at least be an indication that the glaze was well applied and reasonably free from cracks.

To ascertain the cause of the valve atction, tests were made on a flat block of porcelain of good quatity. The resistance being far too great for casy measurement, the glaze was partially removed by gtindiag in order to approach the condition of an ordinary switch hase and at the same time obtain a smooth flat surface. Three small electrodes, A, B, and T (see Fig. 30), were secured to


Fig. 30.-Glazed Porcelain Block fitted with three electrodes for investigating the polarity or "valve" effect.
the surface, and the method of experiment was to measure the resistance of the path A B and compare it with that of the path T $B$, the region round $B$ being common to both paths, Current was never allowed to traverse the path T B for more than two or three seconds at a time-just. long enough to allow the ohmmeter reading to be notedand hence any substantial increase which might be observed in the resistance of this path would be confined to the neighbourhood round electrode B and would be the result of current flowing in the path A B. It was found that when current, flowing in either direction, traversed the path A B the resistance of this path gradually rose until by the time the current had been flowing for half an hour or so the resistance would be twenty or thirty times the initial value, By cutting off the current in A B and immediately taking the resistance of the reference path T B, it was at once seen whether the increase in A B had taken place at electrode B or not. In this way it was proved that when electrode $B$ was positive, practically all the increase in the resistance of A B occurred at or near $B$; and when that electrode was negative then no material change took place there. That is to say the increase in resistance that results from the leakage current is almost entirely confined to the region round the positive electrode, the conductor where the current enters the carthenware. In one experiment the initial resistance of the path

A B was fo megohms, and on switching on fle testing easrent, which in this instance entered the porcelain at $A$, the resistance rose to several thousand megohms in the course of Lwo or lluree minutes. During this lime the refercnce path T B changed from an intial value of $8 \%$ megohms to a final value of 8.2 megolnus. Hewce of the enormous increase in the resistance of A B only o'z megohm oceured in the region near the negative electrade B; practically the whole increase look place in the region of the positive electrode A.

By making both the electrodes very small, the resistancechange may be made to take place almost instantaneously, no matter which way the current flows. If one electrade has a smaller area than the offer then the change will take place more quickly when the cotrent enters the china at the small electrode than it does with the eurent going the other way. By using one very small electrode and one of fair size, the increase is easily made to occur so quickly when the small electrode is positive that it will appeat to take place instantaneonsly, whereas when the electrode of large area is positive the change may take place so slowly that no material alteration will be detected in the time occupied by an ordinary insulation-test. The word "area" is used here in rather extended sense, for it is clear that a metal piece laving a large area in contact with the glazed surface might act as an electrocle of small area if there happened to be only a few small cracks in the glaze available for the passage of current from the metal into the body of the earthenware. In this connection it would be more precise to refer to access to the interior of the insuJator than to aren, although the two sometimes mean the same thing.

Access-area is frequently the result of accidental circumstances. The screw holes in a porcelain base are often insufficiently glazed, and hence the fixing screws for the terminal pioces are apt to have rather easy access to the conducting earthenware beneath the glaze. It is a matter of chance which of two screvs will have the better access, and although any individual switeh may show a marked valve effect simply because one terminal has a better access than the other, yet at complete installation of similar switches may show no such effect, because they aro coupled up to the wiring without any regard to valve direction, and the installation could only show a polarity effect if there chanced to be more valves opening one waty than the other.
But chance is not always the governing factor. Where there is some systematic difference in access-area, arising out of constructional features and accompanied by a systematic coupling to a circuit, there the circuit as a whole will show the valve effect. An overhead telegraph line is a good example. At every insulator the line wire, and its binding on the well-glazed surface of the insulator, bas a fat smaller access-area than the fixing bolt embedeled inside the earthenware. Such a line will have a higher iosulation resistance to earth when the line is made positive thau it has when the polarity is reversed. Electric wiring when tested from circuit to earth will show the valve effect for much the same reason.
The increase in resistance at the posilive electrode seems to be due to the clogging of the leakage channels, both the cracks in the glaze and the capillary passages in the body of the earthenware, by the products of electrolysis. But
it is significant that the valve effect is almost as great when platiuum electrodes are substituted for the usual brass pieces. In this case oxygen atone is produced at the positive clectrode, but some chemical change evidently takes place in the region near the electrode because even with platinum the eattrenware is observed to become discoloured, and the resistance remains at the increased value for 24 hours or more after culting off the leakage curcent. This seems to point to some solid non-conclucting substance choking the pores of the insulator. The action of endosmose in driving moisture from the positive lowards the negative electrode must not be overlooked. If in this way the water sere driven out of the cracks in the glaze near the positive electrode, a very large increase in resistance might easily take place. But upon the vinole the facts point to clogging by the chemical action accompanying electrolysis, although endosmose may play a subordinate part.

An installation of wiring, which when new may have no valve aetion when lested from wire to wire, will soon acquire it if the supply is by contimons current. In this case the positive side of every porcelatin switch base becomes so clogged by the prolonged electrolysis which groes on whenever the switch is open, that a systematic difference in access-area comes abont, the positive terminals in contact with the clogged earthenware acting as the electrodes of small access-area.

The insulation valve is thus seen to be closely related to other well-known electrical valves which depend for their action on the two electrodes having widely different freedom of access to an electrolyte. Glazed carthenware seems peculiarly well adapled to produce a valve effect, but no doubt other porous insulators may be found to act in the same way.

As to the question whether the normal resistance or the abnormal is to be laken as correct, the answer must be that both are real, both are effective in preventing leakage. In a contintuous current system the higher value is the one which actually governs leakage if the polarity of the system remains unchanged. But in telegraphy this is not always the case, and it is no cloubt advisable to carry out insulation
tests on overhead lines with the line wire negative and use the lower resistance value, so obtained, it estimating the sigualling capacity of the circuit.

Nove.-In introducing the paper the author gave an experimental demonstration of the moisture effect by means of a mirror ohmmeter having a seale 30 feet in length and casily visible to a large audience. Measurements of insulation resistance were made at a series of ascending voltage of (1) a dynamo, (2) a varnished winding, (3) the skin of the hand, and (4) a model insulator composed of a bundle of capillary glass tubes filled with water


Fig. 31.-Moisture Curves plotted from readings taken in the coutse of the experimental ctemonstrationat The Institution of Electrical Engineers, on 27 th November, 1013.
Curas A: Insulation Resistance of a Dymano, lent for the experiment by Mr. W, Clark.
Curac is : Resistance of a Model Insulator prepared by Mr. Littiejolm, composed of a bundle of capilary ghass tuties.
and bubbles of air. Two moisture curves plotted from the readings so obtained are given in Fig. 31. The readings were noted by Mr. E. B. Vignoles.

## Discussion before The Instrmution on 27 Th November, 1913.

Professor Silvanus P. Thomipson : I think that Mr. Evershed's paper will be, at any rate for some years to come-if not for more than some years-a standard of reference, and we shall look back upon it as a very definite and notable contribution to our knowledge of a very ill-explored but important branch of our science. We have known all too little about the conductance of insulators, and I think we shall be particularly indebted to Mr. Evershed for having directed our attention to what is very rightly called the characteristic curve of insulation resistance. It may be that we shall not always express ourselves in the same terms ; it may be that we shall perhaps not always take exactly the ratio of the apparent resistatice at 500 volts and at 50 volts; but at any rate, whatever we do in the future, we have now a datum to start from. Mr. Evershed suggests the measured resistances at 50 volts and 500 volts as furnishing a pair of points of reference, with a curve joining them which we can compare as between one substance and another to see
whether they betave alike in their conducting properties and for that definition, if for nothing else, I think this Sivrinus paper is valuable. It will be our own fault if, having now the means of measuring the insulation resistance in other cases and with other materials, we do not choose to follow the lead that Mr. Evershed has given us, and produce characteristic curves which shall be comparable, in the way in which they are made and plotted, with his. He has latid the foundation, therefore, for a certain definite advance in our knowledge and our means of expressing our knowledge on this subject. When I have said that, I have not said what is perhaps even a grater mątter for those of us who have listened to Mr. Evershed; again and again throughout his paper Le bas given us excellent suggestions, hints, and points to excite our curiosity and our imagination as to what it is that is going on-as to what are the pliysics of this particular process of the leakage of electricity through the substances which are commonly called insulators. We must all lave been impressed, for example,
with that execedingly beautifal arrangement of films of water in capillary tubes to imitate by known applinences the belaviour of the water in the pores of solichs. When he asked us to think of these porous channels ramifying about in all manner of tortuous directions, baving blind ends and holding dormant water which could not take any part in the conductance because it led nowhere, when he gave us this apert-Lhis vision, as it were-mof the interier of a solid, surely we carty anday with us a picture in our minds which we can filf up at leisure ats more knowledge comes, and we stall be better able to grasp what is going on in materials when we make measurements in the laboratory or in the workshop.
One of the most important points comes out strongly ; that is, how very litte of the water that is absorbed by atn insulator takes any part in the operation. Althongh it may be that only one-millionth part of the whole of the water is really conducting the leakage current ftrough it -and how difficult it is to stop that miltionth!-is it not a most remarkable fact that no chemical substance has yet been found with which to impregnate paper or any of those cellulose materials so as effectively to stop those minute channels? We may parchmentize the material and get rid of its fibre; we may shat is termed vulcanize it; we may impregnate with vitriols, oils, fats, and all manner of varnishes, etc. ; but we are continually elucled by the water which for ever manages to permeate through the cellulose material. It may be that some day a chenical discovery will be made which will enable us to impregnate paper so that it shall not conduct; but that discovery has yel to be made. How many of us would be glad of a paper product which would insulate, say, as well as ebonite, to say nothing of gutta-percha, or jvory, or ainber.
F Among the things that come out clearly in this paper, and from what Mr. Evershed calls the instability of the liquid film, is that we do not get a constant insulation resistance or insulation conductance of moisture unless a considerable number of channels are in parallel. The significance of that, if we analyse it, is surely that conductance in a liquid is connecled with movement-with the movement of the liquid itself, of the molecules or ions ; because such liquicls never conduct without being ionzed. There is always chemical action in that sense going on, and that means movement. We may have looked in old text-books at the pictures of molecutar chains across an electrical cell, and perhaps we have looked in vain for them through ou microscopes: yet something very closely akin to this maty be seen. If we place on a slip of glass in a microscope a flam of a liquid which inclucles minute particles of, say, gamboge paint (a resin), or minute giobutes of milk, and examine the liquid when a eurent is passed through it, we should not see molecular chains, although we shall see small particles; but these are not in rows as represented in text-books. On the contrary we should notice lively movements, chains of twos and threes dodging about. Conductance through a liquid is always a plenomenon of lively movement, and that is going on in these tubes. Unless we can obtain a sufficient number of paths to regularize out the movement in any one chain, then, of course, we get instability: We only get statistically a kind of stability that will permitt of steady measurement.

In Fig. 5 Mr. Evershed showed us the decrease of the resistance as the voltage is increased, and how the curve
relums back on itsell with what he, in a rash monent, Professor described as a kind of hysteresis. Wemust be very eatefit thampsm. about the rise of the word "hysteresis." To my mind, if one wishes to study hysteresis one must pursue a phen nomenon right round a cycle. But what would happen if the voltage were repeatedly raised to 500 and reduced to zero? Would a loop be oblained? A zighagging curve would result until a stable bottorm was reached. Mr. Evershed assures me that altimately a loop is obtaned. I am pleased to hear that, because we may be able to calculate something from that loop. I should like Mr. Evershed to deal with that point in his reply.
There is one important critieism I should like to make. I must prolest most emphatically against the notion that there are any substances which do not obey Ohm's law. Ohm's law is true under all circumstances for every kind of conductor, or insulator, or current, or anything else. It depends entirely ou the definition of "resistance." I do not know any way of ascertaining the resistance of a body except by passing a current through it ; the name "resistance" is given to the ratio between the electromotive force that is supplied aud the current which results. That is Maxwell's definition. What Mr. Evershed undoubtedly meant, and what those people mean who say that sonething does not obey Ohm's law, is that the resistance is not constant. When condtucting a current the resistance of some substances changes because the molecular condition is being allered. If we think of a liquid carrying a current, and of all the molecular movement that is going on, can we expect the resistance to be constant whether the current is flowing or not? No, the resistance decreases as the current is increased; butohm's law is still true, for $E / R$ still equals 1 . It is sometimes said that Ohm's law is not true if there is a back electromotive force ; but so long as we do not distegard the back electromotive force Ohm's law is still true. Some people, again, get the idea that Ohm's law is not true for an alter. nating current merely because they neglect to insert in the equation the back electromotive force due to the reaction of self-induction. I do not know a single thing that does not obey Ohm's law. Not even in the voltaic arc is Ohm's law violated.

In conclusion, I venture to suggest to the world of electricians that to shorten the phrase "insulation resistance" we should use the term "instlance."

Mr. C. I. Beaver: While the paper is of more direct Mr. interest to makers of eloctrical machines, instruments, and Beaver. apparatus than to cable-makers, we are all very much indebted to the author for his collation of facts and the very interesting denonstrations he has made, particularly those with the model insulator. Most of the phenomena referred to in the paper are familiar to cablemakers, who have always recognized the necessity for protecting fibrous insulation by won-absorbent coverings such as lead, and thereby sealing off the insulating material from contact with moisture. They have always recognized that it is impossible to maintain efficient insulafion resistance in absorbent dielectrics, however well dried and impregnated these may be originally, unless such seals or barriers against moisture are employed. The absorbency of fibrous materials is due to capillarity, which means a much greater susceptibility to moisture than would be due to other effects such as condensation,
deliquescence, ete. The capillarity of fibrous materials such as those mentioned in the paper is due not only to the structure of the paper or woven rabric as a body, but also to the capillarity of the individual fibres themselves. The sequence of events demonstrated by the chatacteristic cirve for cotton (Fig. 1) corresponds exactly to the cahle-makers' experience as to what happens during breakdowns from moistare faults. The osmotic effects illustrated by the first part of the carve merge into the formation of electrolytic produets in the dielectric and incipient charring in the second part, passing to final breakdown in the third part of the curve. With regatd to the general character of the moisture curves shown for the various kinds of absorhent insulation and moisture films, I would point out that the fall in resistance with increase of tosling voltage is simply a matter of the electrodes not making contact wilh the virtual condactor confained in the non-conducting mass of fibrous material. tmagine a range of materials varying from conductors, through absorbent and therefore imparfect or variable insulators, to non-absorbent insulators. At ench end of the range we get a constant relation between resistance and voltage, but in the intermediate materials swe apparently do not. The reason obviously is that the condlucting component of these materials moves ahout in the cellular structure ; in other words, the insulating and conducting components do not form a homogeneous misture aud are not uniformly distributed, therefore we do not make efficient contact with the conducting component and do not get a conductivity proportional to the resistance of the two components. To take a simpte parallel, if we set out to measure the resistance of a stranded conductor, say of aluminium, the strands of which are making bad contact with one another, we should have to connect up every wire of the strand to the test leads before we obtained a true resutt. The reason for the difference between the curve for oil conlaining water (Fig. 21) and oil-impregnated paper also containing moisture (Fig. 22) becomes obvious when viewed from this standpoint. In the former we have a homageneous mixture, and in the latter a collection of substances, the conducting component of which camot make contact with the test electrode.

The "valve effects" referred to by the author have been well known in cable practice for very many years. It is because of these effects that factory tests on cables are always made with a negative current. In Governmentand other standard specifications it was customary until a fow years ago to specify that cables should be tested with both positive and negative currents, and the results compared. A difference of not more than 5 per cent in the insulationresistance figures thus obtained rendered the cables liable to rejection. The custom lapsed because in course of time cable manofacture arrived at such a stage of perfection that the test with negative electrification could be solely telied on. The varions bysteresis effects noted by the author are probably closely comected with "valve effects." In relatiou to Fig. 8 the author refers to the real dielectric resistance of cables as compared with what he calls the cistomary resistanco. It may be of general interest to point out that the customary method of testing the insulation resistance of cables by "loss of charge" is the only practical method. The real dielectric resistance is much greater than is indicated by the nominal grade
or guaranteed figures. It may also be pointed out that the Mr. steadiness of the rale of "loss of charge" gives a valuable Beaver, indication as to the soundness or otherwise of a cable mader test, which is quite independent of the observed value at the end of the standard one-minute electrification. It is obvions that to measure the real dielectric resistance chn give no advantage for cable-testing purposes over the conventional method, and the enormous difference in time required would necessitate the ratio of works areat to lest room area being inverted. Porcelain has been referred to in the paper and the appendix as an absorbent material, but it is not necessarily so. Porcelain can readily be oblained which is so lhoroughly vitrified throughout its mass that it is non-absorhent and does not depend on its glazing for non-absorbency.
Finally, I can bardly agree with the statement contained in the author's conclusions, that it is customary to account for breakdown by dielectric stress. As a matter of fact the primary cause of a breakdown is hardly ever dielectric stress per se. In the vast majorily of eases, whatever the primary cause, the presence of moisture is almost invariably found to be the chief contributory cruse, and as the anthor's work appears to confirm very conclusively my opinious in this direction, the logical conclusion to my mind is that absorbent materials should be used as little as possible for general insulating purposes unless they can be either absolutely protected-as in the case of the paper-insulated cable-from access of moisture, or free to dry out under working conditions. There are other electrical points of view from which this is highly desirable, but they do not come within the scope of this paper.
Mr. C. H. Wordingmant: The author has referred to Mr. Word"blind" lests, by which he means applying a high pres- inglame sure and not knowing what goes on. I quite agree that Such tests are very unsatisfactory and very unscientific; but I minst say that, in my experience, I have found them exceedingly useful, and I am content to wait, as I have been waiting for a great many years, for Mr. Evershed to provide means to enable us to kinow what is going on. I should like to ask Mr. Evershed what is the date of Mr. Holt's experments in Australia with the switches with porcelain bases. I know that about 1892 or 1893 Dr. John Hopkinson, with Professor Ernest Wilson's help, rather carefulty looked into the effect of electric endosmosis, and $I$ know that for some months after I had a good deal of experience with electric endosmosis on underground mains, largely on rubber cables in pipes. Reference has been made to porcelain being porous. Vitrified porcelain can certainly be obtained, and so far as I knew up to the present it was not porous; I have hitherto altributed all moisture effects to moisture on the surface of the insulator. The author does not seem to make any distinction in this paper, and probably quite rightly, between the conduction of the moisture within the material and the conduction of the moisture on the surface; but I think a great deal of the moisture must undoubtedly be on the surface. At all evenls, if long surface leakage paths are provided we all know that very much better results are obtained than with short paths, even though the distance measured through the dielectric may not be longer, or substantially longer, in one case than in the other.
Mr. B. Welbourn : As I read this paper I could not Mr help thinking of a well-known quotation from Browning, Welbourn.

Howern.
"Oli but a man's aim should exceed his grasp," I thought of this particularly at the end when Mr. Evershed sug. gested that the problem of forestalling brealdowns by systematic testing is nearly insoluble. Perlaps it is so, but with our present knowledge a great deal of systematic mains testing is being donc, and a large proportion of insipient faults are removed from mains networks by regular testing without the consumer knowing anything it all about it. An extremely useful tool which has been provided for all maius engincers is the "Megger," for which I think Mr. Evershed is responsible, and which is an enormons advance on the old ohmmeter and generatorThis in itself is a very good illustration of the rapid advance of knowledge. The atuthor mentions, in a footnote on page 5 I, the flash test. I do not know whether the flash test is a "method of barbarism," but in my opinion it will not disappear very rapidly. I should like Mr. Evershed to suggest an alternative because all electrical circuits are liable to sudden pressure rises, and I do not know of any test which is in any way comparable with the flash fest for showing up the suifability of the insulation lo withstand these rises. I shoutd also like to ask Mr. Evershed whether all the curves have been taken at uniform atmospheric temperatures, and whether artificial means were adopted to ensure that the insulating material was always at the same temperature, or whether the increasing dielectric loss due to the rise of the potential was allowed to heat up the dielectric. To all cable-makers especially it has been an exceedingly interesting problem to theorize as to why the insulation resistance of a cable should fall when pressure is applied and when the dielectric heats. This paper has thrown considerable light on the problem, and the author has convinced me that the theory put forward originally by Mr. Camphell and communicated to this Institation some years ago by Mr. Rayner and acknowledged by Mr. Evershed in his paper, is correct and that the effects are mainly due to moisture and air. I should further like to ask Mr. Evershed whether the fall in dielectric resistance is only due to moisture and air, The paper and impregnating oil themselves have physical propertics which possibly change when electrical pressure is applied, and it may be that that also has some influence on these curves; but as far as 1 can discover from the paper the author gives no indication of his views on that point.

Now, for reasons given by the author, all the tests described it the paper have been made with continuous current, and some of them illastrate the canses of effects well known to all those whose work lies in the distribution of electricity by continuous current, such as the "valve" effect and the collection of dust and moisture through endosmosis. It reminds me of a particular nee of the lowtension triple-concentric cable originated some years ago by Sir Alexander Kemmedy where he made the core of the triple-concentric cable the negalive pole instead of the positive pole, as is the usual practice, and I thiuk it was effective in getting rid of some of the low insulation troubles with the neatral conductor on distribution networks. In these days when alternatiog-carrent work is so much to the fore, it would be very useful if the author could spare the time to make some tests wilh alternating current, and publish the results. There is no doubt whatever that the faults on alternating-current networks are far
fewer-in fact almost non-existent-ltan on continnous. Mr. current metworks. To mains engineers, the application of Welborm. allernating-carrent pressure for some hours is a well-known mothod of temporarily gelting rid of low insulation on con-(inuous-current matas if alternating current is available. I think some engineers might draw the inference from this paper that if we could get rid of all the moisture and air in absorbent insulators we should approach a sort of electrical millennium; but I would ask the author if he has considered whether it is really advisable to get rid of all the moisture and ans. Every attempt that cable-makers have made to get rid of meisture las only resulted in brittle paper and the destruction of that flexibility which is so essential in handling cables.
Under the general litle of "Characteristics of Insulation Resistance" one can rather range outside the exact contents of the paper. I have been very much impressed in the last lew weeks in re-reading Dr. Russell's paper read before this Institution in 190\%.* In that paper a characteristic of insulation comes out in wlifich moisture in a cable appears to play very little part, namely, the different helayiour of a given thickness of insulation wilh condactors of varying radius. In connection with Fig. 8, Mr. Evershed calls attention to the test laken after electrification for one minute, and this has already been referred to. The result is understood by all cable men as only being qualitative, but it gives an approximate iden of the true state of the insulation. Longer tests could be made if required, but, as Mr. Beaver has just indicated, there are limitations of time and space in every works.

Professor A. Schwartz : On page 55 the author mentions Profesor that the only non-absorbent insulators which were tested ${ }^{\text {Schwarte. }}$ in the course of his work were gutta-percha and rubber. He states that "these are both non-absorbent in the sense that what little water they may be capable of absorbing is entirely unable to form leakage paths through the insulator." While this statement may be quite true as regards gutta-percha and vulcanized rubber, it is hardly correct for pure rubber, The classical experiments of Thomas Hancock, which extended over 30 years-from 1826 to I856-in which he hermetically sealed i2 olnces of water in a rubber bag and watched its evaporation from year to year, shows conclusively that at ordinary atmospheric pressure water is capable of being absorbed by, and of passing through, pure rubber. Pure rubber will absorb about 25 per cent by weight on prolonged immersion in water and increases considerably in volume ; there is no dotibt also that in its passage through pure rubber water very much affects the insulation resistance. In ingo7 I tested some pure rubber flexible cables of 2,000 -megohm grade ; a ro-yard length was tested in air with a pressure of 550 volts, and the insulation measured between the conductors was found to be 6,000 megohms. On immersing the cable in water the insulation foll almost at once to 80 megohms ; in a week to 40,000 megohms; and in 8 days it broke down with a pressure of 400 volts. A piece of vulcanized flexible cable pul through a similar test showed, as in the author's case, that no appreciable effect was obtained. The amount of water that is absorbed by pure rubber depends partly on the character of the rubber, that is, on the amount of resin or oil which it contains, and partly on the physical condition of the rubber. Freshly

manufactured pure rubber absorbs water readily, bat if the robber is allowed to rest it becomes hard atad comparatively inextensible, and in that conctition it is mone resistant to the absorption of water. Mr. Lester Taylor told me some time ago that he had had a pure rubber Hexible cable feeding a 100 -volt lamp for severat months without any trace of breakdown, although inmersed in water all the time.

I should like to refer to this question of the physical condition of rubber a little more in detail, becrase some of the changes that may take place in it are so considerable, and take place within such a small range of temperature, that when Mr. Evershed comes, as I hope lic will do, to investigate the lower part of his curve, I think it would be interesting if he could consider the effect of these clianges. (The speaker then exhibited the behaviour of a strip of rubber under the action of heat.) It is evident that the molecular condition of rubber undergoes a very considerable change at a comparatively low temperature; in determining the linear coefficient of expansion of a "rested" strip I found that this change takes place between $33^{\circ}$ and $35^{\prime \prime} \mathrm{C}$; t 1 p to $33^{\circ} \mathrm{C}$. the rubber is in a hard and imelastic state, and above $35^{\circ} \mathrm{C}$. it is in a plastic state. The author has described the state of things that obtains in the inside of a porous insulator. I have been interested in this subject from rather a different point of view, namely, in connection with the problem of the rise of sap in trees; and as at good many of our porous insulators are vegetable in origin, and since many of our inorganic insulators have a capillary structure, I think perhaps it would not be without interest if we consider very briefly what results have been reached by the physicists and the botanists who have been experimenting in this somewhat difforent field. In the first place we do not find in plants a continuous system of water channels; we fincl the bulk of the channels are intersected with innumerable longitudinal and transverse partitions dividing them up into very small compartments. It is rather curious, considering that the function of these chammels is to take water from the roots to the leaves, that we should find them intersected nearly all the way up by numerous transerse partitions. We find, however, in the cells numerons air bubbles present, just as in the author's experimental tubes, and these bubbles, alternating with drops of water form Jamio's chains. The botanists consider that to to 50 per cent of the channels are filled with air, but I think that Mr . Evershed's resistance measurement method will help them in estimating more closely than they have been able to do by the microscope the proportion of chaunels which are filled with air. Now it is evicient that whatever movement takes place in these chains of air and water-whether it is by endosmosis or by any other agency-(he bubbles will not be able to pass through the partitions, and whero we have long cells a bubble forming in one of these will put a large proportion of the conducting tube out of action, or at any rate it will introduce a very high resistance in the couducting tube. But by dividing the condacting tube up into a number of small cells by means of transverse parlitions we have the size of the bubbles limited, and we see that if a cell is put out of actiou, or has oxtra resistance introduced into it by means of an air babble, the length of the high-resistance filur is limited by the length of the
cell. The faet that the bubbles are confined in very smatl Professut cells by longiludinal pattitions means that only an infinitesimal portion of the whole of the conclucting area of the circuit is interfored with by a bubble. An intercsting reference was made by Professor Silvanus Thompson to the question as to whether we should over be able to get material with pores small enough to prevent the ingtess of water. I am afraid that the work of botanists shows us that the smaller the pores the more easily the water-vapour gots into them. Messts. Brown \& Escombé: found in Igoo that the diffusion of water-vapour througlt a number of minute pores in in impermeable membrane will be greater than through one large aperture having a cross-section equal to the area of the pores. This is due to the increased efficiency of transmission at the periphery of the aperture as against the efficiency of the transmission at the central portion of the orifice, and as the size of an aperture is reduced the relation of its margin to its area is inoreased. The prevailing idea in botanical circles as to the rise of the sap is that it is due to tension in the water induced by evaporation. I do not know that the possibility of an electrical cause has been considered, and I should like to ask the author in this connection what is the lowest voltage at which he has found endosmosis take place.

Mr. E. H. Rayner (communicated): Those of us who Mr, Rayner. have worked on insulation know that the labour apparent in any paper on insulation is only a small proportion of the amount which has actually been speni, a large proportion of the experimental work being the unmentioned preliminary experiments, which give the author the moral authority to publish the results of such fual experiments as he deents of value. Before tuming to the one point upon which I especially desire to dwell, I should like to suggest that notes on the effect of a few degrees' change of temperature would be instructive. Without experimental experience it is difficult to realize how greatly the resistance of an absorbent insulator may change with quitea small variation in temperature. The possibility of moisture being associated with mica is mentioned on page 60. When testing mica under a high voltage I have often noticed that the violence of the brush discharge on the surface diminishes after the first few minutes, which I have ascribed to driving off a surface film of moisture. Some further details as to the dimensions of the apparatus used in measuring the resistance of oil would be of use. Do the numbers in Fig. 21 refer to the actual resistances as measured, or to the valuc per cubic centimetre? The absorption curve for the oiled paper cable is very interesting. Does the author think the same resistance would be obtained if the paper were absent and the same quantity of water associated with oil only? And does the paper plus oil absorb much more moisture from the air than the oil alone would? Some note as to the "natural" amount of water in the paper used for the experiments in Table I would be of interest. There is no mention as to whether this condition falls within the limits of the experiments described. It is very satisfactory to find thai the results of my own work mentioned on page 65 agree so vell with those of the author.
I now turn to one particular point which has been

* Brown © Escoume. " Static Diffusion of Gases and Liquids in Plemts." Ithilosophical Trunsactions of the Rayat Socicty. B, wot. 193.

Rayner, mentioned by Mr. Wordingham and ofher speakers. On page 51 the author asks, "What is the margin between working voltage and breakdown? That is the fundit. mental question at the root of every inquity into the properties of insulation. To couduck tests without any means of ascertaining what is going on in the imsulator as the breakdown voltage is approached, without either observing the current or, better still, the resistance, is to shut our eyes and doliberalely avoid looking Eor the cause of failure." And agatin (on page 75) he asks "whether it is possible to predict the brealidown vollage. . . . a blackened hole appeas in the insulation and the inference is too hastily drawn that the puncture process was instantancous. . . . The time may never come when it is possible, by systematic insulation testing, to forestall breakdown by diagoosis of the disease and removal of the cause." Within certain, possibly wide, limits I think
weak places in the insulation, more especiatly where the Mre Rayner. conductivity is greafly increased by any local heating at dangerous spots. In lesting small pieces of insulating cloth ample warning is given of the apptoach of breakdown. Whether the method can be as usefully employed for finisloed machines can only be determined by trial. The apparatus consists merely of a sensitive moving-coil ammeter (a micro-ammeter by R, W. Paul) and a baltery inserted at any convenient part of the circuit. Small cells for pocket lamps can be mounted compactly, so that a battery giving it pressure of 100 volts weighs about 12 lb . Fig. A shows a diagram of the connections and the resuit of a test on three thicknesses of Empire cloth swound on a cardhoard tube rvith tinfoil electrodes, the area being 130 sq , cm. The allernating voltage was 2,500 and the continuous voltage 100 . The contiruous voltage alone prodnced no perceptible current in the instrument. On


Fig. A.


Fig. B.
the answer is already in the affirmative. It is possible, with simple apparalus, to test insulation of an organic and absorbent nature under an alternating voltage, and to see exactly what is happening; to lean whether the insulation is likely to withstand the voltage indefinitely, whether and how soon it is sure to lail, with the great advantage that the pressure test may be stopped betore permanent damage is done. Some mothod of determining whethor am electrical plant is insufficienlly dried ont for ranning for the first time after erection could not but be of great commercial value.
As the author states, alternating-current measurements are useless in showing the leakage cmment through insulation, as it is exceedingly small compared with the eapacity curcot. An allernating-current watmeter will give the required information; but it is hatdly a practicable workshop instrument. It is, however, patacticable, while applying a high-voltage alternating test pressure to insulating material, to add in the circuit a much lower continuous potential which will find its waty through the
switehing on the atternating current the ammeter indicated 4 micro-amperes, which increased in 6 minutes to $z_{1}$ micrommperes. On switching off the altennating vollage the reading falls to I and diminishes still further. On switching on again, the alternating voltage causes instantly a greak increase in the continuous current, and failure rapidly takes place.* The very great drop in the contiouous current on switching off the alternating voltage is important. It shows the futility of assuming that the insulation resistance of a high-voltage machine under working conditions can be assumed from tests made by much lower continuous potentials. Fig. B shows the result of a similar test at a lower voltage ( 2,000 ), which was applied for 40 minutes and then raised to 2,250 . As in the previous experiment, the aiternating voltage was switched off for half a minute and the experiment was stopped a minute after switching on again a few seconds before actual failure occurred. The material has become
*E. H. Ravacin "Trigh-voltage Tests and Energy Losses in Insulating Materials." Founal I,E.E., vol. 49, P. 47, 1912.

Mr. kavwer, darker locally over an areat of a fow squate eentimetres, but actual puncture has not taken place. I do not know that the method has been tried on finished machines. It will be seen that the atternating eurrent traverses the condinuous-current instrument and causes some vibration of the pointer undess this is very stifl. The only difficully would appear to be the aftermating capacity current, which would be much larger than when testing a comparatively small picce of insulathg material. No doubt a specially rigid moving system would be of considerable help and might suffice. The instrument might have a very large inductance adeded to it, saty the primary of a switchboard potential-transformer, and the ammeter and inductance be shunter by a large condenser through which most of the altemating cmrent passes. Mr. Irwin lells me that he has found an induchance of 4 herries and a capacily of 20 microfatads suceessful. The condensers should be protected by a spark-gap, as the [ull voltage would come on them if failure occurred in the iusulation under fest.
Mr. C. P. Sparks (comunthitated) : Mr. Evershed raises an interesting question: "What is the margin between working voltage and breakdown?" and suggests that the problem should be determined by continuous-current insulation tests rather than by the application of an alter-nating-current pressure test; the difficulty of using any sensitive instrument with alternating corrent is pointed out in Section 2 of the paper. While I am in agreement as to the advantage of using an indicaling instrument, this has yef to be evolved for alternating current, and untii this is possible I am in favour of continuing the use of alter-mating-current testing, not in the form of a flash test referred to in his note, but in the form of an alternatingpressure test applied for short periods. At present this is the only feasible method of testing high-pressure apparatus, and is a more reliable indication of the condition of the plant than can be obtained by a continuouscurrent insulation test carried out with a pressure of a. few hundred volts. Section 4 of the paper refers to the relative importance in wiring between the leakage through the dielectric used to insulate cables, and the leakage through fittings. The importance of the leakage from fittings was appreciated by the Institution Wiriug Rules Committee when ameuding the rutes some years since, is is shown by the following extact from Rule 12T:
" 12 T . The insulation resistance to eitrth of the whole or any part of the wiring must, when tested previously to the erection of fiftings and electroliers, be measured with a pressure not less than twice the intended working pressure, and must not be less in megohms than 30 divided by the number of points (par. 32) under test. For this purpose the points are to be counted as the number of pairs of terminal wires from which it is proposed to take the current, either directly, or by flexibles, to lamps or other appliances."

Section 53 of the paper deals with a model insulator tested with continuons current. Have similar tests been made with alternating current? These should show the breaking up of the films between the sepavate drops of moisture, thus increasing the insulation resistance. In conclusion, Mr. Evershed's paper will be welcomed by all, as it demonstrates the initial reason why afternating curent cables and other apparatus are far less tronblesome to maintain than continuous-current apparatus whon worked under equal dielectric stress.

Mr, A. 1. Babtlett (communicaled) : I wolcome the Mr. Bothent research described in the paper as one of great value, not only for the actual results already obfatned but for what it may, and I hope will, lead to. Such methods and knowledge should help us to select our insulation materials in a more tational manner aud it nay bo, to prodnce netv and more satisfactory forms of flexible insulators; but from the dymamo and motor manufachaners point of view I must in common witli two ofther speakers protest most emplatically against the author's condemuation of the flash test. I believe that few engineers anderstand the reat object the plant mannfacturer has in view when he fixes and apples a definite flash or pressure test. It is not applied, as many seem to imagine, simply to furd out whether the insulation will stand a definite pressure between, say, the windings and the shell-having provided a factor of safety, he knows it will, unless the material has been damaged or has faulty spols which could thot be detected before use. If any such weak points oceur he wants to discover them, and I know of no other method which can approach the pressurc test for this purpose, because it is not only necessary to know that such weak points exist, but they must be located, and even in "a costly piece of electrical apparatus" it is cheaper in both time and cost to burn the fault out; at this stage he is not concerned with what actually happens to the damaged insulation at the moment of breakdown. To emphasize the real object of the flash test, I may say that it has been my practice to fix the vollage of the flash test quite independently of the working voltage, e.g. in the case of a low-voltage, say 50 volts, generator, if I know that the insulation materials in that machine are identical with a machine built for a working voltage of 500 volts, as is frequently the case, 1 test for damage to the insulation with a 2,000 -volt presstre test, which may appear to be heroic, but is good sound practice; I should imagine that cable-makers have probably the same object in view. Anyone who has had experience on the testbeds knows that an insulation test even when applied at a more or less high pressute by means of a 1,000 -volt testing set often fails to reveal the presence of air-filled cracks in the insulation, simply because there is not sufficient power behtind the lest. Humdreds of cases have occurred in which machines have broken down under a pressure test after having just previously shown highinsulationresults with high-voltage testing sets. The plant manufulurer can no more forgo his pressure test than cat the crane- and lift-builder or boiler-maker forgo his overload stressing tests.

To the plant builder the experiments on the varnishimpregnated colton-covered wire are of great interest, and my own experience agrees with the results obtained, viz. that the effect of such impregnation is quite ephemeral. I have for years unsuccessfully advocated that all fiod coils of such machines as are to work in an ordinary weatherproof building should be wound dry and varnished only on the outside layer, or taped over and varnished. Impressnating such coits has practically no effeet on the dielectric strength to earth, and reasonabiy dry cotton is ample instlation between the turns and layers in a well-designed coil. I have seen a namber of the old field coils of aucient two-pole machines unwornd in which the cotton ivas in excellent condition, ahtiongh wotnd diy. On the other

Mr. Bartlet. hand I have seen a number of enses of impreguated coils giving trouble owing to the varnish breating down and acquiring an acid reaction ; this is a real danger and one which in my opinion it is quite unnecessary to run. The author mentions stoving his varnished materials at $55^{\circ} \mathrm{C}$. which I do not think can be recommended; he referred to a special varnish which heuses, and if le has a varnish that will stand this temperature not only on a thin coil such as he used, but in a normal field coil-in which the solvent in the interior takes many years to evaporate or oxidize-then I hope he will disclose it as it might be of greal value in such cases where impregnation is advisable.
$\mathrm{Mr}, \mathrm{A}$. Camplell (communicated): As one who attaches great importance to consistent nomenclature, I regret to sce that the author uses the ferm "characteristic curve" quite out of its ordinary meaning (i.c. volt-ampere curve). To give any scientific lerm a donble moaning reduces its efficiency by much more than 50 per cent. The author's theory appears to be well supported by many experimental results, and in particular by the behaviour of his beatifut model, but I fear that the exammation of a wider variety of absorptive insulating materials will make the theory more difficult to accept. Some years ago in experimenting on fibrons insulating materials (like paper) at various temperatures I came to the conclusion that the effects observed had their origin in the tubular structure of the fibres. Not long afterwards I found that: solid cellulose behaved very much like ordinary paper. Now the solid cellulose is a fibreless colloidal material (like a sheet of glue), and its pores must be of a quite different order of magnitude from those of paper. Since reading Mi. Evershed's theory I have had a few rather hurried experiments made on some colloidal materials, which have given the following values for the "Resistance Ratio" for $V_{40} / V_{4}$ :-

| Solid cellulose | $\ldots$ | $\ldots$ | $\ldots$ | 27 |
| :--- | :--- | :--- | :--- | :--- |
| Celluloid $\ldots$ | $\ldots$ | $\ldots$ | $\ldots$ | 12 |
| Cellulose acetate... | $\ldots$ | $\ldots$ | $1^{\circ} 0$ |  |

The third material is the well-known flexible enamel now so much used for covering wires; it is somewhat absorhent of moistare, but not nearly so much so at aty form of celtulose. It will be noticed that the other two colloids show "Resistance Ratios" greater than unity, and yet their gluey structure does not suggest porosity in the ordinary sense. It appears to me, therefore, that the effeot of moisture is mainly molecular, not explamable by the assumption of water films working in microscopic ehamels. Cellulose and other similar colloids appear always to have (at any given temperature and pressure) a certain proportion of water associated with them, part of which may be in loose chemical combination, and the remainder, as it were, in solution in the colloid, The tubular structure of some of the fibrous forms of cellulose no doubt must have considerable influence on their behaviour as insulators, but any theory must take account of the bitimate colloidal nature of the material. I hope the author will examinc the behavious of some of the non-fibrous absorbent insulating materials (Bakelite for example) and if neecssary widen his theory to include them all.
Mr. Eairsto.
his experiments. He uses copper plates faterleaved with arr. Bairsto. the shects of clielectric. Now it has been shown hy Mr. Appleyard, , and recently in more detail hy myself,t that in usiag tinfoil, which is obviously oven better suited than copper plates for producing a more intimate contact with the dielectric, an increase of voltage has a very considerable inftuence in producing an apparent decrease in the resistance as the voltage is increased. This will take place even with a very high compression of the dielectric, say 15 or $20 \mathrm{1b}$, per sq . in. The more rigid copper plates used in the present experiments would tend to enhance this effect. There ate two points described it the paper which make me suspect that the imperfeet contact is responsible to a certain extent for the rapidly falling characteristic curve shown in most of the figures. The first is in Fig. 5, in which we have a so-catled hysteresis effect depending upon whether the voltage is increasing or decreasing. Now this hysteresis effect is well known to those who have studied tiafoil contact with ordinary dry dielectrics, and is due to the influence of the voltage in pulling down the electrodes into contact with the dielectric. The second point is illustrated by Fig. 17, where the change of characteristic from a gradualfy falling curve to a straight line, ats the dielectric becomes sorlden with water, is explained as f change from "moisture conduction" to conduction by Olm's law. It eotild, however, be explained in quite a different mamer, Starting with a dielectric having a resistance independent of the vollage, curve A may be taken to represent the influence of voltage in bringing about a more intimate contact as has just been described. In curve $C$, however, the paper being now sodden with water will have a surface film of moisture, allowing the current to creep along the face of the dielectrio from the points at which the electrode is in contact, to, and through the parts of the dielectric which are not touching the electrodes. That is to say, the effect of the presence of the moisture film is to produce a contact which is almost as good as if every part of the dielectric were in thorough contact with the electrodes. We should then get, as in curve C , a straight line showing a resistance independent of the voltage. I do not maintain that all the effects described iu the paper are due to this effect, buf I feel sure that it has had a considerable influeuce. It cannot be separated out, and the only way in which comparative tests can be made is by employing mercury electrodes. I may mention that in a long series of experiments made at University College it has been found that at low-potential gradients up to about 5,000 volts per cm . there is no variation of resistance with voltage, and this is true for such widely different dielcotrics as mica and cellaloid, using ordinary dry materials and morcury electrodes. As the potential gradient is still further increased the resistance falls away in a manner similat to that depicted in the lower portion of Fig. I. Supposing, however, that the results obtained by the author represent the state of affairs for damp insulation, then it must be agreed that what we are discussing is not the chatacteristios of insulation at all, but rather the characteristics of water in insulation.
$\mathrm{Mr} . \mathrm{R}, \mathrm{D}$. Givford (commenticated) : It is apparent that Mr. Gifiord, this paper is the outcome of a very thorough investigation. It is probably only those who have had to make resistanee

[^5]Mr. Gifford, and breakdown tests on insulators who can really appreciate how fully the factors which usually go to obscure the truth have been recognized and taken account of. There is one point, however, to which I should like to call the author's attention, as I do not see it mentioned in the paper. He says, on page 53 , that the source of current was usually a 500 volt baltery, and occasionally a small $\mathrm{x}, 000$-volt generator, The author has emphasized in several places in the paper how greatly the true value of the insulation may be masked by the capacity current, which effect must be considerable where we are lesting the insulation resistance of a cable or network of feeders. Now the E.M.F. of a battery may be represented by a smooth line, but surely the E.M.F. of a generator cannot be so represented ; it must have a surface ripple, since it is made up of a number of commutated waves. Under those circumstances it is apparent that a capacity current will be superposed on the insulation current, vitiating the results to a greater or lesser degree. Moreover, the ripple will be much more conspicnous in the case of the small generator E.M.F. than in an ordinary continuous-current supply, as the number of commutat or segments is necessatily relatively few. I shall therefore be glad if the author will state whether he made any tests, such as with an oscillograph, to ascertain the magnitude of these ripples, and also if the results obtained when using the generator were consistent with those obtained when using the battery.
Mr. Cottle.
Mr. P. J. Cottle (communicaled): Mr. Evershed's paper is of great interest to telephone engineers who are confronted with the problem of maintaining the insulation of dry-core cables, The pictorial representation of the action of moisture in reducing the insulation resistance of absorbent insulators may throw some light on many desiccation problems. In this country it is usual to desiccate paper-core cables with dry air, but French telephone engineers have recently extensively employed dry $\mathrm{CO}_{\mathrm{e}}$ for this purpose. Apart from considerations of cost and inconvenience it is claimed that a certain volume of dry $\mathrm{CO}_{5}$ is more efficient than an equal volume of dry air for raising the insulation of a paper-core cable. It is found on the completion of desiccation with $\mathrm{CO}_{2}$, that the insulation has been raised by an amount quite equal to that obtained by using an equal volume of dry air, but that in the former case the insulation resistance continues steadily to rise after the completion of desiccation. Does the author consider that owing to the greater density, and the consequent slower rate of diffusion of $\mathrm{CO}_{s}$, this gas should be more effective than air in redncing the proportion of water in the paper which acts as a conductor?
Dr. Ashton.
Dr. A. W. Ashton (commutnicatcd): In adopting the conclusions arrived at by the author we must not lose sight of the fact that the testing pressure was continuous and that the materials tested gave results mainly determined by the amount of moisture absorbed. In cases where the leakage is neither due to absorbed moisture nor surface moisture the true dielectric leakage is proportional to the applied voltage. In the paper this is shown to be true in the case of cylinder oil (see Fig. 21, Curve A) and varnished cotton (see Fig. 34, Curve A). This true dielectric leakage, determined by prolonged charging at a steady pressure, is only of use as an indication of the presence of condacting impurities in the dielectric. On the other hand the apparent conductivity after one minute's electrification
is, I believe, much more important in the case of a good Dr. Ashton. dielectric than it is generally considered to be. According to what may be called the Pellat-Schweidler-Hopkinson theory of dielectric absorption, there is a direct relation between the charging current after one minute's electrification and the energy loss under an alternatiug E.M.F. If this theory is true the so-called insulation resistance in the case of a cable free from fatults gives an indication of its capability of withstanding the prolonged application of an alternating voltage, where brealdown is probably due to an increase in temperature caused by dielectric losses.
With regard to "blind" tests of breakdown voltage, there are two factors for the determination of which the breakdown test is of use, vi\% the effect of the geometrical form of the insulator and the strength of the dielectric to resist disruptive discharge. The application of the flash test will detect the presence of faults due to design or to manufacture, and will determine whether the dielectric is able to withstand the mavoidable transient prossure rises due to switching on, etc. On the other hand the prolonged pressure test during which the material is kept under observation by measuring the energy dissipated, will enable the possibility of changes in the dielectric due to electric stress or to temperature rise to be investigated.

Mr. S. Evershed (in reply): The discussion has ex- Mr. tended a good deal beyond the area covered by the paper, Evershed. and the many interesting matters tonched upon by the several speakers serve to remind us of the enormous area as yet unexplored in the field of insulation. In replying to the discussion I must, however, confine myself to those points which bear directly upon the facts recorded in the paper.

Dr. Thompson spoke of the extraordinary difficulty there is in keeping water out of an absorbent body. At present, as he said, it seems quite impossible to keep it out, and until the great discovery, which he referred to, is made we must put up with what Nature has given us. I should like to point out that but for the marvellous power an absorbent body has of stowing away almost the whole of the absorbed water in an electrically dormant state much of the work we now do would be commercially impossible. If the whole of the absorbed water took part in making leakage paths, low-tension networks as we know them would be useless. In such networks we do not measure insulation by megohms, but by amperes sometimes a great many amperes; for the leakage current clepends on all sorts of circumstances-and on the mains engineer. But if Nature had allowed all the absorbed water to conduct, then for every ampere leaking under present conditions we should have had a leakage current of many thousands of amperes. Nature is sometimes on our side. I was very much interested in what Dr. Thompson said about the inevitable instability, the complex motions, of water which is carrying an electric current. When we look through the microscope at the films in our little glass model the unstable motions are going on under our eyes. We see why individual tubes are often so extraordinarily unstable. At one moment the film water will be travelling along in one channel, and the next moment, for no apparent cause, it will divert itself into another path altogether. But this of course refers to water films on glass, and I suspect that the extremely smooth surface of the glass accentuates the
instability. It may well be that in that respect glass is not truly representative of other insulators. Dr. Thompson asked whether the moisture curves obtained by first ascending and then descending the vollage range formed loops or not. They certainly make a loop, and there is an accompanying waste of energy. When the potential difference is applied the hydranlic force of endosmose is utilized ( I ) in overcoming the quasi-elastic capillary force of the film into which the dormant water is driven, and (2) in overcoming the fluid friction of the moving water, Upon switching off the pressure, the surface tension or capillary force of the film very slowvly forces the surplus water out of the film into the adjacent water drops, and in so doing the reversible energy stored in the form of surface tension is all frittered atway in overcoming the fluid friction incurred in driving the surplus water back into the dormant drops. Hence in going through a complete voltage cycle the whoie of the energy due to the endosmose action is lost-degraded into heat. And since the surplus water retires into the drops with extreme slowness, and the flooding of the film may be made to take place almost instantaneously if we choose to apply a high potential difference, the area of the loop and waste of energy may evidently be reduced to any extent by performing the cycle with great rapidity. The analogy with magnetic hysteresis is evident. There is the "lagging behind " and the waste of energy, and if only we had the power to perform a complete magnetic cycle so quickiy that Ewing's little magnets had barely time to move, the magnetic loop could doubtless be reduced in area to the same extent as the loop in a rapidly executed cyclic moisture curve. But the analogy must not be pushed too far.

Ohm's law is a perennial stumbling-block. I was taught io believe that it is comprised in the statement that "a current through a given conductor is proportional to the E.M.F. which drives it." * When we find a conductor in which this proportionality doos not hold good (notwithstanding the fact that the conductor undergoes no apparent change in its dimensions or in its temperature), then we are justified in saying off-hand that it does not follow Ohm's law. But we do not for a moment believe that Ohm's law has failed us. On the contrary we suspect at once that our "given conductor" has in some occult way allered its electrical dimensions and changed its resistance. When we examine the case of the absorbent insulator we discover that the absorbent body which we assumed to be the "given conductor " is not a conductor at all. We find that the actual conductor is made up of a number of films of water and that each film has its sectional area increased as the potenlial difference increases. And in this way the apparent failure of a law which we believe to be universally true is accounted for, I have never heard the universal truth of Ohm's law more clearly expressed than it was by Dr. Thompson, and although he and I do not speak the same language I agree with every word of his statement. But I slall continue to speak the language I have been accustomed to all my life, the free and easy speech of everyday intercourse, I shall continue to say the sun rises, although I know perfectly well that he only appears to rise bec.use I happen to live on a revolving planet.

* Oliver J. Longe. "Modern Views of Electricity," p. 69, cdition ISNig.

I quite agree with Mr. Beaver that it is commercially B impracticable to measure the insulation resistance of rubber-covered cables, since each test might occupy 24 hours. I do not object to the cable-maker measuring the charging current plus leakage current at the end of One minute if the test gives him useful knowledge, but I confess I should like to see the phrase "insulation resistance" restricted to its proper use, undiluted by charging current.
Mr, Wordingham expressed the hope that means would some day be forthcoming by which it would be possible to see what was going on while the insulation is undergoing a pressure test. The means have been available for many years past, but we have not chosen to take advantage of them. All that is necessary is a high-tension continuouscurrent dynamo, and a galvanometer to give timely warning of latent defects. So far from being averse to highpressure tests, as a manufacturer I regard them as absolutely indispensable, But I want to see an improvement in the usual mode of conducting them; let as have our eyes wide open. Mr. Wordingham also drew attention to the effects due to moisture on the external sturfaces of insulators. In the early stages of our reseatch we made several attempts to investigate the law of conduction in films on external surfaces, but experimental difficultios have so far prevented us from arriving at any useful results, External films are unlikely to give a moisture curve because in the absence of drops on the surface there is no dormant water available to flood the film. No doubt the action of endosmose, if sufficiently prolonged should result in an increase in the resistance of the film, provided the water is driven away from the positive electrode at a greater rate than that at which fresh water is being deposited out of the air.
1 was very glad to hear what Mr. Welbourn sad about the systematic testing of distribution networks. It is indeed good to know that already a large proportion of latent defects are discovered and removed; to know that in a great many cases breakdown is forestalled. But when I refer at the close of my paper to the problem as a whole seeming almost insoluble I an thinking of the complete system, from the plant in the power house to the installation on the consumer's premises. The mains may be cut up for the purpose of testing, but it is impossible to cut up the generator and transformers, and it is in such things that the difficulties of diagnosis are greatest. It is there hat our aim exceeds our grasp. Mr. Welbourn referred to a number of interesting phenomena which are familiar to the cable-maker and the mains engineer, such as the marked difference between the number of faults occurring on continuous-current and alternating-current networks, and the use of alternating current as a remedy for low insulation. These things are but vaguely known to those who, like myself, are interested in tracing the causes of such effects, and I feel sure there is room for a good descriplive paper on the subject written by someone who has first-hand knowledge.

- Professor Schwartz drew our attention to the difference between pare rubber and valcanized rubber as regards absorption of moislure. Hancock's experiment has never appealed to me as conclusive because I have never come across any rubber that did not perish after two or three years' exposure to the air, or to water containing air in
solution. After such exposure the rubber is full of minute cracks. The poor insulation results obtained with flexible cables insulated with pure rubber are, I think, as much due to imperfect joining of the rubber strip round the conductor as to porosity of the rubber. What Professor Schwartz told us about the structure of the capillary passages up which the sap finds its way in a tree-trunk (and I suppose in any plant) cleared away some of the obscurities as to the disposition of the dormant water. There are evidently plenty of cells-blind alleys-to harbour it. But where are we to place the conducting films, with all those cross-partitions apparently blocking the way at intervals along the passages? I think the answer is that since the sap goes through the partition they must be porous ; and in the pores are the films, with bodies of dormant water tyinig close at hand on both sides of the thin wall. A disposition of that kind is particularly well adapted to produce the endosmose effect, as Mr. Finnis and I have already discovered by experiments on thin porous tubes. I can only answer the question Professor Schwartz put to me about the limit potential gradient below which endosmose will not take place by saying that I do not think there is any limit. The lowest gradient at which I have actually seen the water pouring out from a drop into the film was about 25 volts per cm .; but judging by the decrease of resistance, the effect begins a long way below that point.
While I have been investigating the first part of the characteristic curve, Mr. Rayner has been at work at the National Physical Laboratory on the last part of the breakdown curve. His method of testing by superposing altermating current on continuous current is very interesting, and the resulting effects are quite new to me. He was kind enough to communicate the preliminary results to me a few days ago, and I asked Mr. Finnis to carry out similar tests on a piece of vulcanized rubber flexible. With defective cable we get just the same kind of effects as those which Mr. Rayner has described to us. What the explanation may be is another matter. And this reminds me that several speakers have referred to the effect of temperature on the characteristic curves. When the insulator is near the breakdown point it may easily be that a large amount of power is being spent in heating it. This las already formed the subject of an interesting paper which Mr. Rayner gave us last year.* But throughout the moisture curve the power spent is almost immeasurably small, and hence there is no sensible heating of the insulator. We have never observed any appreciable rise of temperature in making tests on the first part of the characteristic curve. Replying to Mr. Rayner's question, the resistance values in Fig. 21 are those actually measured; the lest was purely qualitative.
Mr. Campbell tells us that since reading the paper he * Yourmat L.E.E., vol. 49, p. 3, 19iz.
has carried out "a few rather hurried tests" on colloidal Mr. materials, and he gives us the resistance ratios obtained. Evershed. These are, however, no criterion for a voltage-resistance curve, in the absence of any knowledge of the sbape or law of the curve. I hope Mr. Campbell will continue his investigation of colloidal insulators and give us carves based upon a prolonged experience of their behaviotir.
Mr. Bairsto refers to the effects occurring at the contact between electrode and insulator. In the earlier stages of our research Mr. Finnis and I attempted to lind an explanation of the moisture curve at the terminals, but like many other hypotheses which occurred to us, it entirely failed to provide an explanation in agreement with all the facts. It was not until we directed our attention to the inside of the absorbent insulator that we made any progress at all.

Mr . Gifford mentions the small capacity current due to the ripple superposed on the E.M.F. of a testing generator. This is of course an alfernating current and does not affect the reading of the galvanometer, or ohmmeter, one way or the other.
Mr. Sparks refers to the Institution Wiring Rule No. 121 as it now stands. This rule is based on the number of pairs of terminals from which it is proposed to take current. This is very far from being the same thing as the number of leakage points, and, as I have pointed out in the footnote on page 57 , it is the average resistance per leakage point which enables ns to judge whether an installation is in good or bad order. Incidentally I may suggest that the ordinary wireman would more easily multiply the ohmmeter reading by the number of leakage points than perform the simplest division sum. I share his weakness. Mr . Sparks suggests that the application of an allernating potential difference should break up the films in the model insulator. I have not tested the model wilh allernating current, but I have little doubt that Mr. Sparks is right. I think the film water would tend to collect in a licap halfway between the surfaces of the adjacent drops; but fiat axperimen/nm.
Fiat experimentum. Perkaps that is the best answer to those friendly critics of my paper who have expressed a healthy scepticism with regard to my theory of moisture conduction. Let them test a few typical absorbent insulators. Let them make up a bundle of capillary tubes and test them. Put a tube under a microscope and watch the behaviour of the drops and films. They may then feel more confidence in taking the step which I have taken; the step from what I have seen in the tube to what I infer in the absorbent insulator. On the other hand they may unearth fresh facts which give my theory its quietus. Time will show.
In conclusion, I can only say that Mr. Fimnis and I shal! go forward with the investigation of the breakdown curve, greatly encouraged by the cordial reception which has been given to this paper.

The あresban Duty
dNIVIN BROTHERS; LIMTSMD
WOKING AKD LONDON


[^0]:    * For the purpose of this paper it is not necessary to describe the ordinary method by which the leakage current is arrived at by deducting the discharge current from the total current fowing into the cable,

[^1]:    * Let the engineer who has never used in factor of safety cast the fursl stone at this arithmetic.
    - At hest-point i. Lie thead of wades, which is the equiyatent of all the lerkage paths, had been reduced to less than one-quarter of a mil
    in dianeter. in dianmeter.

[^2]:    * Fomitual I.E.E., vot 34, p. 03 T , T005.

    It may be the resistance of a conducting fim on the surtace of the ebonite, for external films have in several cases been found to follow Ohmis, law. The point requires forther investigation.

[^3]:    * The wave-length at the sodimm line in the spectrum is 23 millionths of an inch. It is worth notiog that at its thinnest the film has depth

[^4]:    ** Inside a porous insulator containing a normal amount of moistare the volume of air will vastly exosed the volome of dormant witier, and there must be ionumerable bubbles of air trapperl inside capillary spaces by drops of water.

    + The above explanation of the action of heat on ahsorbent insulation has its origin in a suggestion made by Mr, A. Campbell and sumbodied by Mr. E. H. Rayner in the report on Temperature Experiments at the
    

[^5]:    4. Pnocediniss of the P'lysital Sociciy of Londun, vol, 19, p. 72.f, 1905.

    I Ibid., val. 25 . p. 30I, I913.

